# Micromechanical modeling of a cracked elliptically orthotropic medium 

Jean-François Barthélémy, I. Sevostianov, A. Giraud

## To cite this version:

Jean-François Barthélémy, I. Sevostianov, A. Giraud. Micromechanical modeling of a cracked elliptically orthotropic medium. International Journal of Engineering Science, 2021, 161, pp. 103454. 10.1016/j.ijengsci.2021.103454 . hal-03118242

HAL Id: hal-03118242

## https://hal.science/hal-03118242

Submitted on 3 Feb 2023

HAL is a multi-disciplinary open access archive for the deposit and dissemination of scientific research documents, whether they are published or not. The documents may come from teaching and research institutions in France or abroad, or from public or private research centers.

@(®)

# Micromechanical modeling of a cracked elliptically orthotropic medium 

J.-F. Barthélémy ${ }^{\text {a,* }}$, I. Sevostianov ${ }^{\text {b }}$, A. Giraud ${ }^{\text {c }}$<br>${ }^{a}$ Cerema, Project-team DIMA, 110 rue de Paris, BP 214, 77487 Provins Cedex, France<br>${ }^{b}$ Department of Mechanical and Aerospace Engineering, New Mexico State University, Las Cruces, NM 88001, USA<br>${ }^{c}$ GeoRessources Laboratory, Université de Lorraine (ENSG), CNRS, CREGU, F-54518 Vandoeuvre-lès-Nancy, France


#### Abstract

In this paper, we derive the second-order crack opening displacement tensor for an arbitrarily oriented elliptical crack in an elliptically orthotropic (EO) matrix. This result is obtained in explicit closed form. The approach is based on the Saint-Venant's idea of linear transformation between boundary value problems for elliptically orthotropic and isotropic bodies. The solution utilizes the classical representation of an ellipsoid crack where the smallest aspect ratio approaches zero and the transformation of the Taylor expansion of the corresponding Hill tensor. It is shown, in particular, that transformed cracks have neither the same in-plane aspect ratio nor the same vanishing aspect ratio. It requires a correction factor in the crack opening displacement tensor. Some specific relative orientations of the crack with respect to the symmetry planes of the EO matrix are considered in detail and effective properties are calculated in the case of randomly distributed cracks. The result is also extended to the case of a cylindrical (plane strain) crack.


Keywords:
crack opening displacement tensor, elliptically orthotropic matrix, linear transformation, elliptical crack, cylindrical crack

[^0]
# Micromechanical modeling of a cracked elliptically orthotropic medium 


#### Abstract

In this paper, we derive the second-order crack opening displacement tensor for an arbitrarily oriented elliptical crack in an elliptically orthotropic (EO) matrix. This result is obtained in explicit closed form. The approach is based on the Saint-Venant's idea of linear transformation between boundary value problems for elliptically orthotropic and isotropic bodies. The solution utilizes the classical representation of an ellipsoid crack where the smallest aspect ratio approaches zero and the transformation of the Taylor expansion of the corresponding Hill tensor. It is shown, in particular, that transformed cracks have neither the same in-plane aspect ratio nor the same vanishing aspect ratio. It requires a correction factor in the crack opening displacement tensor. Some specific relative orientations of the crack with respect to the symmetry planes of the EO matrix are considered in detail and effective properties are calculated in the case of randomly distributed cracks. The result is also extended to the case of a cylindrical (plane strain) crack.


## Keywords.

crack opening displacement tensor, elliptically orthotropic matrix, linear transformation, elliptical crack, cylindrical crack

## 1. Introduction

In this paper, we focus on the effect of an elliptical crack on the overall compliance of an elliptically orthotropic elastic material. First evaluation of a crack contribution to the elastic moduli of isotropic material has been done by Sack [1] for a penny-shaped crack. His result was used by Bristow [2] for calculation of the overall elastic properties of an isotropic material containing multiple randomly oriented circular cracks. O'Connell and Budiansky [3] and Budiansky and O'Connell [4] proposed a methodology to evaluate effects of planar cracks of the elliptical shape in isotropic materials based on the knowledge of the stress intensity factors. Similar method has been used by Rice [5] for a crack of any shape (in a material of any symmetry) for which stress intensity factor is known as a function of a position vector and crack size. The results obtained by this method are summarized by Kachanov and Sevostianov [6]. Detailed review of the results on crack contribution to overall elastic properties is given by Kachanov [7].

The problem of an elliptical crack in an anisotropic medium was first addressed by Willis [8] who relied on the Fourier transform to express the stress field around the crack as well as the crack opening displacement in a general compact form by means of contour integrals. Hoenig ([9], [10]) used the properties of the $J$ integral ([11], [12]) to derive formulas (in the integral form) for the stress intensity factors and crack opening displacements for an elliptical crack in a generally anisotropic media. He showed that the integrals can be evaluated in closed form only for a transversely isotropic material, if the crack is parallel to the plane of isotropy. He also calculated the change in moduli for transversely isotropic elastic media with cracks parallel to the plane of isotropy. Later, results of Hoenig ([9], [10]) on elliptical crack in a 3D anisotropic material have been recovered by different methods (or specified for some particular cases, very often without proper citation). They have also recently been exploited by Laubie and Ulm [13] to examine the problem of propagation of an elliptical crack. Fabrikant [14] calculated crack opening displacement tensor for a single circular crack embedded in a transversely isotropic material parallel to the plane of isotropy using the method of potential functions. The closed form analytical expressions for a spheroidal inhomogeneity embedded in a transversely isotropic matrix have been obtained by various methods in papers of Laws [15], Withers [16], Yu et al. [17], Sevostianov et al. [18] and Barthélémy [19] for the case when rotation axis of the spheroid is aligned with the symmetry axis of transverse isotropy (a circular crack has been considered as a limiting case). These results have been generalized to the case of piezoelectric materials by Dunn and Wienecke [20], Levin et al. [21] and Mikata [22]. Kanaun and Levin [23] presented an integral equation for anisotropic medium with elliptical cracks and its solution
with constant and linear polynomial external fields. They also considered the problem about overall properties of an anisotropic media with multiple cracks.

Guerrero et al. [24] showed that effect of an arbitrarily oriented crack in a transversely isotropic material on the overall elastic behavior can be evaluated from the compliance contribution tensor of a crack in an isotropic material if the extent of anisotropy is mild. Inspired by the observation of Tsukrov and Kachanov [25] who showed that, in 2D, the second-order crack opening displacement tensor is independent of the crack orientation if the coordinate system coincides with the principal directions of anisotropy, Guerrero et al. [26] showed that similar approximately holds in 3D if tensor of elastic stiffness of the material can be expressed in terms of a second-order tensor [27]. This result was used by Seyedkavoosi et al. [28] to calculate overall properties of a transversely isotropic material with any orientation distribution of penny-shaped cracks.

In the present work we consider an elliptical crack embedded in elliptically orthotropic material introduced by Saint-Venant ([29], [30]). As shown by Pouya and Zaoui [31] and Pouya [32], boundary value problems for bodies having elastic symmetry of this type can be reduced to the boundary value problems for isotropic bodies (of, generally, different shape) by simple affine transformation of coordinates. Sevostianov and Kushch [33] and Kushch and Sevostianov [34] showed that many real orthotropic materials can be approximated with good accuracy as elliptically orthotropic (EO) materials and showed how compliance contribution tensors can be calculated for ellipsoidal inhomogeneities embedded in them. In the text to follow, we explore the fact that affine transformation of coordinates reduces the problem about an elliptical crack in EO material to elliptical crack of different aspect ratio in an isotropic matrix. In section 2, after recalling the definition of the EO behavior resulting from the transformation of an isotropic one, the relationships between contribution tensors of transformed problems, at the origin of further developments about cracks, are put in evidence. The link between the fourth-order compliance contribution tensor and the second-order crack opening displacement tensor is then detailed in section 3 for arbitrary anisotropic matrix with a peculiar emphasis on the equivalence between the ellipsoidal representation of a crack and the interface model obtained as a limit when the smallest aspect ratio tends towards 0 . The second-order crack opening displacement tensor of an elliptical crack in an EO matrix is fully derived in section 4 with a deep analysis of its properties and of the approximation of the contribution tensor by its counterpart of an ellipsoid with finite aspect ratio. The result is then applied on some particular cases of matrix anisotropy and relative orientation of the crack with respect to the matrix axes leading to condensed analytical formulas and illustrative graphs in section 5. In addition effective stiffness tensors are calculated in section 6 with a randomly oriented distribution of cracks in order to evaluate the effect of cracking on the anisotropy level. Section 7 is finally dedicated to the careful adaptation of the previous developments to the case of a crack seen as a long cylinder of flat elliptical section and 2D crack.

## 2. Problem of a single ellipsoidal inclusion in an EO matrix and relationships between polarization tensors

Eshelby's work [35] is one of the fundamental bases of micromechanics. The first problem (inclusion problem) consists in a linear elasticity problem posed on an infinite medium of homogeneous stiffness tensor $\mathbb{C}$ while considering a uniform eigenstrain $\boldsymbol{\varepsilon}^{*}$ within an ellipsoidal domain and zero displacement at infinity. The important result is that the strain field solution to this problem is uniform within the ellipsoid where it writes $\mathbb{S}^{\text {Esh }}: \boldsymbol{\varepsilon}^{*}$. The fourthorder tensor $\mathbb{S}^{\text {Esh }}$ is called Eshelby tensor and depends on the elasticity of the medium and the shape and orientation of the ellipsoid. Note that in some literature the Eshelby tensor is sometimes named depolarization tensor (see for instance [36] or [37] in the framework of electromagnetism which is mathematically analogous to elasticity). Another equivalent point of view consists in introducing the prestress $\boldsymbol{p}=-\mathbb{C}: \boldsymbol{\varepsilon}^{*}$ instead of the eigenstrain, which implies that the uniform strain within the ellipsoid then writes $-\mathbb{P}: \boldsymbol{p}$. The fourth-order tensor $\mathbb{P}=\mathbb{S}^{\text {Esh }}: \mathbb{C}^{-1}$ is often called Hill polarization tensor ([38], [39], [40]). Alternatively from a dual approach the uniform stress state of the ellipsoid can be related to the eigenstrain as $-\mathbb{Q}: \boldsymbol{\varepsilon}^{*}$ where $\mathbb{Q}=\mathbb{C}-\mathbb{C}: \mathbb{P}: \mathbb{C}$ is called the second Hill polarization tensor. The second Eshelby problem (known as inhomogeneity problem) still involves an infinite matrix medium but the ellipsoid is now made of another elastic material of stiffness $\mathbb{C}^{\mathcal{E}}$ without any eigenstrain and homogenenous strain conditions are remotely defined ( $\boldsymbol{E}$ denotes the remote strain tensor). The solution to this new problem is easily built from the first one by invoking the linearity and the unicity of the solution. The strain $\boldsymbol{\varepsilon}^{\mathcal{E}}$ and stress $\boldsymbol{\sigma}^{\mathcal{E}}$ states are
uniform within the ellipsoid and satisfy the relationship $\sigma^{\mathcal{E}}-\mathbb{C}: \boldsymbol{\varepsilon}^{\mathcal{E}}=\mathbb{N}: \boldsymbol{E}$ where $\mathbb{N}=\left(\mathbb{P}+\left(\mathbb{C}^{\mathcal{E}}-\mathbb{C}\right)^{-1}\right)^{-1}$ is called the stiffness contribution tensor [41]. Note that this tensor can also be named polarizability tensor in the literature [42].

This section recalls the practical calculation of the polarization tensors of a single inclusion embedded in an EO matrix by exploiting the idea of linear transformation.

### 2.1. The elliptically orthotropic behavior

A stiffness tensor satisfying EO symmetries ([31], [43] and [33]) is defined by its components

$$
\begin{equation*}
C_{i j k l}=\lambda D_{i j} D_{k l}+\mu\left(D_{i k} D_{j l}+D_{i l} D_{j k}\right) \tag{1}
\end{equation*}
$$

which also writes in intrinsic notation (see Appendix A for a detailed presentation of conventions of tensor algebra)

$$
\begin{equation*}
\mathbb{C}=\lambda \boldsymbol{D} \otimes \boldsymbol{D}+2 \mu \boldsymbol{D} \stackrel{s}{\boxtimes} \boldsymbol{D} \quad \text { with } \quad(\boldsymbol{D} \otimes \boldsymbol{D})_{i j k l}=D_{i j} D_{k l} \quad \text { and } \quad(\boldsymbol{D} \stackrel{s}{\boxtimes} \boldsymbol{D})_{i j k l}=\frac{D_{i k} D_{j l}+D_{i l} D_{j k}}{2} \tag{2}
\end{equation*}
$$

where $\boldsymbol{D}$ is a symmetric positive definite second-order tensor and $\lambda$ and $\mu$ are the counterparts of Lamé moduli in the isotropic case retrieved when $\boldsymbol{D}=\mathbf{1}$ i.e. $D_{i j}=\delta_{i j}{ }^{1}$. It is possible to introduce the counterparts of the bulk modulus $k$, the Young modulus $E$ and the Poisson ratio $v$ satisfying the classical relationships $k=\lambda+\frac{2}{3} \mu, 3 k=\frac{E}{1-2 \nu}$ and $2 \mu=\frac{E}{1+\nu}$ and the tensor expression

$$
\begin{equation*}
\mathbb{C}=k \boldsymbol{D} \otimes \boldsymbol{D}+2 \mu\left(\boldsymbol{D} \stackrel{s}{\otimes} \boldsymbol{D}-\frac{\boldsymbol{D} \otimes \boldsymbol{D}}{3}\right)=\frac{E}{1-2 v} \frac{\boldsymbol{D} \otimes \boldsymbol{D}}{3}+\frac{E}{1+v}\left(\boldsymbol{D} \stackrel{s}{\otimes} \boldsymbol{D}-\frac{\boldsymbol{D} \otimes \boldsymbol{D}}{3}\right) \tag{3}
\end{equation*}
$$

Note that the presence of the moduli $\lambda$ and $\mu$ is such that the tensor $\mathbb{C}$ does not lose generality if a scaling constraint is imposed on $\boldsymbol{D}$, for example det $\boldsymbol{D}=1$. Note also that the compliance tensor, inverse of (3), writes

$$
\begin{equation*}
\mathbb{S}=\mathbb{C}^{-1}=\frac{1-2 v}{E} \frac{\boldsymbol{D}^{-1} \otimes \boldsymbol{D}^{-1}}{3}+\frac{1+v}{E}\left(\boldsymbol{D}^{-1} \stackrel{s}{\otimes} \boldsymbol{D}^{-1}-\frac{\boldsymbol{D}^{-1} \otimes \boldsymbol{D}^{-1}}{3}\right) \tag{4}
\end{equation*}
$$

The symmetry of the real tensor $\boldsymbol{D}$ entails that it can be diagonalized in an orthonormal frame. The following tensors can then be introduced for further use

$$
\begin{equation*}
\boldsymbol{D}=\sum_{i=1}^{3} d_{i} \underline{e}_{i}^{D} \otimes \underline{e}_{i}^{D} \quad ; \quad \boldsymbol{\Theta}=\sum_{i=1}^{3} \sqrt{d_{i}} \underline{e}_{i}^{D} \otimes \underline{e}_{i}^{D} \quad ; \quad \boldsymbol{\Phi}=\boldsymbol{\Theta}^{-1}=\sum_{i=1}^{3} \frac{1}{\sqrt{d_{i}}} e_{i}^{D} \otimes \underline{e}_{i}^{D} \tag{5}
\end{equation*}
$$

where $d_{i}>0$ and the unit vectors $\underline{e}_{i}^{D}$ are the eigenvalues and corresponding eigenvectors of $\boldsymbol{D}$. It follows that these tensors satisfy $\boldsymbol{D}=\boldsymbol{\Theta}^{2}$ and $\boldsymbol{D}^{-1}=\boldsymbol{\Phi}^{2}$ so that $\mathbb{C}$ can be linearly related an associated isotropic tensor $\tilde{\mathbb{C}}$

$$
\begin{equation*}
C_{i j k l}=\Theta_{i p} \Theta_{j q} \Theta_{k r} \Theta_{l s} \tilde{C}_{p q r s} \quad \text { where } \quad \tilde{C}_{p q r s}=\lambda \delta_{p q} \delta_{r s}+\mu\left(\delta_{p r} \delta_{q s}+\delta_{p s} \delta_{q r}\right) \tag{6}
\end{equation*}
$$

Taking advantage of the minor symmetries of $\tilde{\mathbb{C}}$ (i.e. $\tilde{C}_{p q r s}=\tilde{C}_{q p r s}=\tilde{C}_{p q s r}$ ), it comes that (6) can be written in an intrinsic form

$$
\begin{equation*}
\mathbb{C}=\left(\boldsymbol{\Theta} \stackrel{s}{\boxtimes}^{s}\right): \tilde{\mathbb{C}}::^{t}(\boldsymbol{\Theta} \stackrel{s}{\boxtimes} \boldsymbol{\Theta})=\mathbb{O}: \tilde{\mathbb{C}}:{ }^{t} \mathbb{\Theta} \tag{7}
\end{equation*}
$$

where

$$
\begin{equation*}
\tilde{\mathbb{C}}=\lambda \mathbf{1} \otimes \mathbf{1}+2 \mu \mathbf{1} \stackrel{s}{\boxtimes} \mathbf{1} \quad \text { and } \quad \Theta=\boldsymbol{\Theta} \stackrel{s}{\boxtimes} \boldsymbol{\Theta} \quad\left((\Theta)_{i j k l}=\frac{\Theta_{i k} \Theta_{j l}+\Theta_{i l} \Theta_{j k}}{2}\right) \tag{8}
\end{equation*}
$$

The interest of intrinsic condensed notations relies in the fact that they put well in evidence the formal similarity between the relationship (7) seen as a transformation between fourth-order tensors and its counterpart for secondorder tensors, which facilitates numerical implementation. Indeed, applying the Kelvin-Mandel convention (see Appendix B) to the fourth-order tensors (which satisfy minor symmetries), the relationship (7) immediately becomes a

[^1]matrix product between $6 \times 6$ matrices. Moreover it is also useful to introduce the fourth-order tensor $\mathbb{P}=\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}$ so that the properties of the tensor product ${ }^{\natural}$ and the symmetries of $\boldsymbol{\Theta}$ and $\boldsymbol{\Phi}$ lead to the following results

As a consequence (7) can be rewritten without transpose symbol and an analogous relationship is obtained between the compliance tensors $\mathbb{S}=\mathbb{C}^{-1}$ and $\widetilde{\mathbb{S}}=\tilde{\mathbb{C}}^{-1}$

Once the orientations of the vectors $\underline{e}_{i}^{D}$ are set, the EO tensor (2) depends on 4 independent parameters: for instance $\lambda, \mu, d_{1}$ and $d_{2}$ or, to preserve the circular symmetry $C_{1111}, C_{2222}, C_{3333}$ and $\eta=\frac{\lambda}{\lambda+2 \mu}$. However, considering the expression of the compliance (4), it may be convenient to introduce engineer parameters such as the directional moduli in each direction $\underline{e}_{i}^{D}$

$$
\begin{equation*}
E_{i}=\frac{1}{S_{i i i i}}=E d_{i}^{2} \quad \Leftrightarrow \quad d_{i}=\sqrt{\frac{E_{i}}{E}} \tag{11}
\end{equation*}
$$

so that the normalization condition det $\boldsymbol{D}=1$ (i.e. $d_{1} d_{2} d_{3}=1$ ) amounts to setting the gauge $E$ from the directional moduli as

$$
\begin{equation*}
E=\left(E_{1} E_{2} E_{3}\right)^{\frac{1}{3}} \tag{12}
\end{equation*}
$$

and the matrix of $\mathbb{S}$ in the Kelvin-Mandel convention (see Appendix B) in the frame $\left(\underline{e}_{i}^{D}\right)_{i=1,2,3}$ writes

$$
\operatorname{Mat}\left(\mathbb{S}, e_{i}^{D}\right)=\left(\begin{array}{ccc|ccc}
\frac{1}{E_{1}} & \frac{-v}{\sqrt{E_{1} E_{2}}} & \frac{-v}{\sqrt{E_{3} E_{1}}} & 0 & 0 & 0  \tag{13}\\
\frac{-v}{\sqrt{E_{1} E_{2}}} & \frac{1}{E_{2}} & \frac{-v}{\sqrt{E_{2} E_{3}}} & 0 & 0 & 0 \\
\frac{-v}{\sqrt{E_{3} E_{1}}} & \frac{-v}{\sqrt{E_{2} E_{3}}} & \frac{1}{E_{3}} & 0 & 0 & 0 \\
\hline 0 & 0 & 0 & \frac{1+v}{\sqrt{E_{2} E_{3}}} & 0 & 0 \\
0 & 0 & 0 & 0 & \frac{1+v}{\sqrt{E_{3} E_{1}}} & 0 \\
0 & 0 & 0 & 0 & 0 & \frac{1+v}{\sqrt{E_{1} E_{2}}}
\end{array}\right)
$$

A new set of independent parameters is then given by $E_{1}, E_{2}, E_{3}$ and $v$ from which the parameters $d_{i}$ can be expressed

$$
\begin{equation*}
d_{1}=\left(\frac{E_{1}}{\sqrt{E_{2} E_{3}}}\right)^{\frac{1}{3}} \quad ; \quad d_{2}=\left(\frac{E_{2}}{\sqrt{E_{3} E_{1}}}\right)^{\frac{1}{3}} \quad ; \quad d_{3}=\left(\frac{E_{3}}{\sqrt{E_{1} E_{2}}}\right)^{\frac{1}{3}} \tag{14}
\end{equation*}
$$

Clearly enough the EO tensors form a subset of orthotropic tensors of axes directed by the vectors $\underline{e}_{i}^{D}$ so it is possible to express the classical orthotropy parameters as functions of these 4 EO ones. Indeed, in addtition to the already defined directional moduli $E_{1}, E_{2}$ and $E_{3}$, the Poisson ratios are obtained as

$$
\begin{equation*}
v_{23}=-\frac{S_{2233}}{S_{2222}}=v \sqrt{\frac{E_{2}}{E_{3}}} \quad ; \quad v_{31}=-\frac{S_{3311}}{S_{3333}}=v \sqrt{\frac{E_{3}}{E_{1}}} \quad ; \quad v_{12}=-\frac{S_{1122}}{S_{1111}}=v \sqrt{\frac{E_{1}}{E_{2}}} \tag{15}
\end{equation*}
$$

and the shear moduli as

$$
\begin{equation*}
G_{23}=\frac{\sqrt{E_{2} E_{3}}}{2(1+v)} \quad ; \quad G_{31}=\frac{\sqrt{E_{3} E_{1}}}{2(1+v)} \quad ; \quad G_{12}=\frac{\sqrt{E_{1} E_{2}}}{2(1+v)} \tag{16}
\end{equation*}
$$

### 2.2. Relationships between polarization tensors

The inclusion under consideration is geometrically represented by an ellipsoid $\mathcal{E}_{\boldsymbol{A}}$ defined by an inversible secondorder tensor $\boldsymbol{A}$ such that

$$
\begin{equation*}
\underline{x} \in \mathcal{E}_{\boldsymbol{A}} \quad \Leftrightarrow \quad \underline{x} \cdot\left({ }^{t} \boldsymbol{A} \cdot \boldsymbol{A}\right)^{-1} \cdot \underline{x} \leq 1 \tag{17}
\end{equation*}
$$

If $a \geq b \geq c$ are the radii of the ellipsoid respectively oriented along the three orthogonal unit vectors $\underline{\ell}, \underline{m}$ and $\underline{n}, A$ writes (see Figure 1a)

$$
\begin{equation*}
\boldsymbol{A}=a \underline{\ell} \otimes \underline{\ell}+b \underline{m} \otimes \underline{m}+c \underline{n} \otimes \underline{n} \tag{18}
\end{equation*}
$$

In order to consider different orientations of the ellipsoid with respect to the matrix anisotropy in the sequel, it may

(a) Ellipsoid

(b) Elliptical crack and Euler angles $\theta, \phi, \psi$

Figure 1: Representations of a crack
be interesting to introduce a parametrization of the three vectors $\underline{\ell}, \underline{m}$ and $\underline{n}$ by a set of three Euler angles $\theta, \phi$ and $\psi$ relatively to the canonical frame (see angle representation in Figure $\overline{1 b}$ ) such that

$$
\left\{\begin{array}{l}
\underline{\ell}=(\cos \theta \cos \phi \cos \psi-\sin \phi \sin \psi) \underline{e}_{1}+(\cos \theta \sin \phi \cos \psi+\cos \phi \sin \psi) \underline{e}_{2}-\sin \theta \cos \psi \underline{e}_{3}  \tag{19a}\\
\underline{m}=(-\cos \theta \cos \phi \sin \psi-\sin \phi \cos \psi) \underline{e}_{1}+(-\cos \theta \sin \phi \sin \psi+\cos \phi \cos \psi) \underline{e}_{2}+\sin \theta \sin \psi \underline{e}_{3} \\
\underline{n}=\sin \theta \cos \phi \underline{e}_{1}+\sin \theta \sin \phi \underline{e}_{2}+\cos \theta \underline{e}_{3}
\end{array}\right.
$$

As the Eshelby [35], Hill ([44], [45]), concentration or contribution tensors of a unique inclusion embedded in an infinite matrix do not depend on the scale of the inclusion or in other words are independent of any homothety applied on the inclusion, the ellipsoid can be replaced by a normalized one and the tensor $\boldsymbol{A}$ by

$$
\begin{equation*}
\boldsymbol{A}=\underline{\ell} \otimes \underline{\ell}+\eta \underline{m} \otimes \underline{m}+\omega \underline{n} \otimes \underline{n} \quad \text { with } \quad \eta=\frac{b}{a} \quad \text { and } \quad \omega=\frac{c}{a} \tag{20}
\end{equation*}
$$

where $\eta \leq 1$ and $\omega \leq \eta$ are the aspect ratios of the ellipsoid.
From Fourier analysis or plane-wave expansion ([46], [47]), the Hill tensor related to a matrix stiffness $\mathbb{C}$ and an ellipsoidal shape characterized by $\boldsymbol{A}$ has been conveniently expressed under the form of integrals over the unit sphere (see Appendix A for conventions of tensor algebra, in particular the definition of the symmetrized tensor product $\stackrel{s}{\otimes}$
in (A.4))

$$
\begin{align*}
\mathbb{P}(\boldsymbol{A}, \mathbb{C}) & =\frac{\operatorname{det} \boldsymbol{A}}{4 \pi} \int_{\|\underline{\xi}\|=1} \frac{\underline{\underline{\xi}} \stackrel{s}{\otimes}(\underline{\xi} \cdot \mathbb{C} \cdot \underline{\underline{\xi}})^{-1} \stackrel{s}{\otimes} \underline{\xi}}{\|\boldsymbol{A} \cdot \underline{\xi}\|^{3}} \mathrm{~d} S_{\xi} \\
& =\frac{1}{4 \pi} \int_{\|\underline{\xi}\|=1}\left(\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right) \stackrel{s}{\otimes}\left(\left(\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right) \cdot \mathbb{C} \cdot\left(\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right)\right)^{-1} \stackrel{s}{\otimes}\left(\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right) \mathrm{d} S_{\zeta} \tag{21}
\end{align*}
$$

As shown in [33] and [19] the Hill polarization tensor of the problem related to $\boldsymbol{A}$ and $\mathbb{C}$ given by (2) denoted by $\mathbb{P}=\mathbb{P}(A, \mathbb{C})$ can be written as the transformation of an associated one $\tilde{\mathbb{P}}=\mathbb{P}(\tilde{\boldsymbol{A}}, \tilde{\mathbb{C}})$ related to the isotropic matrix $\tilde{\mathbb{C}}$ given by (8) and a transformed ellipsoid of tensor $\tilde{\boldsymbol{A}}$ as

$$
\begin{equation*}
\mathbb{P}=(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}): \tilde{\mathbb{P}}:(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi})=\rrbracket: \tilde{\mathbb{P}}: \rrbracket \quad \text { with } \quad \tilde{\boldsymbol{A}}=\boldsymbol{A} \cdot \boldsymbol{\Phi} \tag{22}
\end{equation*}
$$

It is worth remarking that $\tilde{\boldsymbol{A}}$ is not necessarily symmetric but this property is not required since ${ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}$ does actually define the transformed ellipsoid as in (17).

It follows that the relationships (22) and (10) can be used to derive an analogous one for the second Hill tensor defined by $\mathbb{Q}=\mathbb{C}-\mathbb{C}: \mathbb{P}: \mathbb{C}$ and its associated one $\tilde{\mathbb{Q}}=\widetilde{\mathbb{C}}-\tilde{\mathbb{C}}: \tilde{\mathbb{P}}: \tilde{\mathbb{C}}$

$$
\begin{equation*}
\mathbb{Q}=(\boldsymbol{\Theta} \stackrel{s}{\otimes} \boldsymbol{\Theta}): \tilde{\mathbb{Q}}:(\boldsymbol{\Theta} \stackrel{s}{\otimes} \boldsymbol{\Theta})=\mathbb{\Theta}: \tilde{\mathbb{Q}}: \mathbb{\Theta} \tag{23}
\end{equation*}
$$

As recalled in the next section, this second Hill tensor plays an important role in the determination of the compliance contribution tensor of an elliptical crack defined as an asymptotically flattened ellipsoid.

## 3. General results on the compliance of a crack in a matrix of arbitrary anisotropy

This section recalls some important background about the crack compliance contribution and opening displacement tensors in an anisotropic matrix before application to the particular case of an EO matrix in section 4.

A crack is defined here as a void flat pore of elliptical shape (see Figure 1b), in other words the set of points $I_{A}$ such that

$$
\begin{equation*}
\underline{x} \in I_{A} \quad \Leftrightarrow \quad \underline{x} \cdot \underline{n}=0 \quad \text { and } \quad(\underline{x} \cdot \underline{\ell})^{2}+\left(\frac{\underline{x} \cdot \underline{m}}{\eta}\right)^{2} \leq a^{2} \tag{24}
\end{equation*}
$$

As shown in numerous works ([48], [15], [49], [50], [51]), it is convenient to consider the crack domain as the limit of three-dimensional ellipsoid defined by $\boldsymbol{A}$ as in (18) in which $\omega$ tends towards 0 (see Figure 1a) so that

$$
\begin{equation*}
\lim _{\omega \rightarrow 0} \boldsymbol{A}=a(\underline{\ell} \otimes \underline{\ell}+\eta \underline{m} \otimes \underline{m}) \tag{25}
\end{equation*}
$$

and apply results from the Eshelby problem with a particular care paid to the limit inducing indeterminate forms as recalled hereafter.

In the case of an ellipsoidal pore of equation (17) where $\boldsymbol{A}$ is given by (18), the compliance contribution tensor in a matrix of arbitrary anisotropic stiffness $\mathbb{C}$ is obtained by considering a single void ellipsoid embedded in an infinite matrix leading to the following relationship between the average strain tensor in the ellipsoid and the remote stress tensor

$$
\begin{equation*}
<\varepsilon>_{\mathcal{E}_{A}}=\frac{\int_{\mathcal{E}_{A}} \varepsilon \mathrm{~d} \Omega}{V}=\frac{\int_{\partial \mathcal{E}_{A}} \underline{\underline{u}} \stackrel{s}{\otimes} \underline{N} \mathrm{~d} S}{V}=\mathbb{Q}^{-1}: \mathbf{\Sigma} \quad \text { where } \quad V=\frac{4}{3} \pi a^{3} \eta \omega \tag{26}
\end{equation*}
$$

However, as put in evidence in [52], the application of (26) for a flat pore representing an open crack (in other words when $\omega \ll 1$ in (20)) is not the most relevant choice of strain normalization since the volume $V$ tends towards 0
whereas the strain integral term, more judiciously written as a boundary integral involving the displacement $\underline{u}$ and local unit normal $\underline{N}$ fields, has non infinitesimal components on $\underline{n} \otimes \underline{n}, \underline{n} \stackrel{s}{\otimes} \underline{\ell}$ and $\underline{n} \stackrel{s}{\otimes} \underline{m}$ due to relative movements of crack lips. Indeed, when the aspect ratio $\omega$ tends towards 0 , the crack is seen as a plane elliptical interface $I_{A}$ of normal $\underline{n}$ with two facing lips and the boundary integral can be asymptotically written as a plane surface integral over $I_{A}$ involving the normalized crack opening displacement $\underline{b}=\left(\underline{u}^{+}-\underline{u}^{-}\right) / a$ where $\underline{u}^{+}$and $\underline{u}^{-}$are the displacements of corresponding points on the lips respectively directed towards $+\underline{n}\left(\operatorname{lip} \mathcal{L}^{+}\right)$and $-\underline{n}\left(\operatorname{lip} \mathcal{L}^{-}\right.$) (see [53])

$$
\begin{equation*}
\int_{\partial E_{A}} \underline{u} \stackrel{s}{\otimes} \underline{N} \mathrm{~d} S \underset{\omega \rightarrow 0}{\rightarrow} a \int_{I_{A}} \underline{b} \stackrel{s}{\otimes} \underline{n} \mathrm{~d} S=a S<\underline{b}>_{I_{A}} \stackrel{s}{\otimes} \underline{n} \quad \text { where } \quad S=\pi a^{2} \eta \tag{27}
\end{equation*}
$$

A better normalization choice of the compliance contribution of the crack can then be obtained by multiplying (26) by $\omega$

$$
\begin{equation*}
\lim _{\omega \rightarrow 0} \omega \frac{\int_{\partial E_{A}} \underline{\underline{u}} \stackrel{s}{\otimes} \underline{N} \mathrm{~d} S}{V}=\frac{a \omega}{V} \int_{I_{A}} \underline{b} \stackrel{s}{\otimes} \underline{n} \mathrm{~d} S=\frac{a \omega S}{V}<\underline{b}>_{I_{A}} \stackrel{s}{\otimes} \underline{n}=\frac{3}{4}<\underline{b}>_{I_{A}} \stackrel{s}{\otimes} \underline{n}=\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1}: \mathbf{\Sigma} \tag{28}
\end{equation*}
$$

This writing presents the double advantage of putting in evidence the role played by the crack compliance tensor $\mathbb{H}=\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1}$ as depicted in the literature ([48], [15], [49], [50], [51]) and its link with the symmetric second-order crack opening displacement tensor $\boldsymbol{B}$ introduced in [7] ${ }^{2}$ allowing to relate $\left\langle\underline{b}>_{I_{A}}\right.$ to $\boldsymbol{\Sigma} \cdot \underline{n}$

$$
\begin{equation*}
<\underline{b}\rangle_{I_{A}}=\boldsymbol{B} \cdot \boldsymbol{\Sigma} \cdot \underline{n}=(\boldsymbol{B} \stackrel{s}{\otimes} \underline{n}): \boldsymbol{\Sigma} \tag{29}
\end{equation*}
$$

Note that the existence of such a relationship (29) is due to both the linearity of the problem and the fact that only the components $\boldsymbol{\Sigma} \cdot \underline{n}$ of $\boldsymbol{\Sigma}$ play a role in the crack opening displacement. Indeed the problem defined by a remote stress tensor is the superposition of a problem of uniform stress within the matrix $\boldsymbol{\Sigma}$ (not producing any crack opening displacement) and a problem in which the lip $\mathcal{L}^{+}$is subjected to $\boldsymbol{\Sigma} \cdot \underline{n}$ and $\mathcal{L}^{-}$to $-\boldsymbol{\Sigma} \cdot \underline{n}$. In addition the symmetry of $\boldsymbol{B}$ results from an immediate application of Maxwell-Betti reciprocal work theorem.

It follows from the introduction of (29) in (28) that

$$
\begin{equation*}
\mathbb{H}=\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1}=\frac{3}{4} \underline{n} \stackrel{s}{\otimes} \boldsymbol{B} \stackrel{s}{\otimes} \underline{n} \tag{30}
\end{equation*}
$$

As shown in [53], [55], [56] or [25], the structure of $\boldsymbol{B}$ and in particular its dependence or not on the crack orientation govern the symmetry of the macroscopic stiffness of a material embedding several families of cracks. For instance it has been shown in [53] that the $\boldsymbol{B}$ tensor corresponding to a cylindrical crack (2D crack) and an isotropic matrix is purely spherical and thus independent from the crack orientation so that the non interacting approximation (NIA) applied to a material containing such cracks leads to an orthotropic behavior whatever the distribution of crack lengths and orientations. More general complete analytical resolutions of the displacement field in an anisotropic medium wih a single 2D crack are derived in [55], [56] or [25] in which $\boldsymbol{B}$ can also be found as a constant tensor under some conditions (matrix orthotropy).

Whereas (30) already gives an insight of the particular structure of $\mathbb{H}=\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1}$, a deeper analysis of the latter limit as presented in [50] not only confirms this structure but also provides a practical method for analytical if possible or at least numerical determination of the fourth-order crack compliance for example in the full anisotropic case. The reasoning allowing to analyze $\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1}$ starts with the Taylor expansion of $\mathbb{P}$ (see expressions (21)) which writes as

$$
\begin{equation*}
\mathbb{P}=\mathbb{P}_{0}+\omega \mathbb{P}_{1}+O\left(\omega^{2}\right) \quad \text { with } \quad \mathbb{P}_{0}=\underline{n} \stackrel{s}{\otimes}(\underline{n} \cdot \mathbb{C} \cdot \underline{n})^{-1} \stackrel{s}{\otimes} \underline{n} \tag{31}
\end{equation*}
$$

[^2]The first order term $\mathbb{P}_{1}$ can be expressed under integral forms suitable for a numerical identification if an analytical resolution is out of reach (see [50]). Besides the second Hill tensor is expanded as

$$
\begin{equation*}
\mathbb{Q}=\mathbb{Q}_{0}+\omega \mathbb{Q}_{1}+O\left(\omega^{2}\right) \quad \text { with } \quad \mathbb{Q}_{0}=\mathbb{C}-(\mathbb{C} \cdot \underline{n}) \cdot(\underline{n} \cdot \mathbb{C} \cdot \underline{n})^{-1} \cdot(\underline{n} \cdot \mathbb{C}) \quad \text { and } \quad \mathbb{Q}_{1}=-\mathbb{C}: \mathbb{P}_{1}: \mathbb{C} \tag{32}
\end{equation*}
$$

The existence of a non-zero limit of $\omega \mathbb{Q}^{-1}$ clearly comes from the singularity of $\mathbb{Q}_{0}$. On the one hand it is clear that the three last tensors of $\mathcal{B}^{*}$ (B.4) (i.e. $\underline{n} \otimes \underline{n}, \sqrt{2} \underline{m} \stackrel{s}{\otimes} \underline{n}$ and $\sqrt{2} \underline{n} \stackrel{s}{\otimes} \underline{\ell}$ ) belong to the kernel of $\mathbb{Q}_{0}$ and on the other hand the three first of $\mathcal{B}^{*}$ (i.e. $\underline{\ell} \otimes \underline{\ell}, \underline{m} \otimes \underline{m}$ and $\sqrt{2} \underline{\ell} \otimes \stackrel{s}{\otimes} \underline{\text { ) }}$ ) tensors belong to the image of $\mathbb{Q}_{0}$ since they are eigenvectors of $\mathbb{Q}_{0}: \mathbb{C}^{-1}$. It follows from these observations as well as the major symmetry of Hill tensors that $\mathbb{Q}_{0}$ and $\mathbb{Q}_{1}$ can be represented by the following matrices in the basis $\mathcal{B}^{*}$ (see (B.5))

$$
\operatorname{Mat}\left(\mathbb{Q}_{0}, \mathcal{B}^{*}\right)=\left(\begin{array}{c|l}
X & 0  \tag{33}\\
\hline 0 & 0
\end{array}\right) \quad ; \quad \operatorname{Mat}\left(\mathbb{Q}_{1}, \mathcal{B}^{*}\right)=\left(\begin{array}{l|l}
Y_{11} & Y_{12} \\
\hline{ }^{t} Y_{12} & Y_{22}
\end{array}\right)
$$

where $X$ and $Y_{i j}$ are $3 \times 3$ block matrices such that $X, Y_{11}$ and $Y_{22}$ are invertible. This implies that the limit of $\omega \mathbb{Q}^{-1}$ can be conveniently obtained by a matrix calculation (see detailed proof in [50])

$$
\operatorname{Mat}\left(\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1}, \mathcal{B}^{*}\right)=\lim _{\omega \rightarrow 0} \omega\left[\left(\begin{array}{c|c}
X & 0  \tag{34}\\
\hline 0 & 0
\end{array}\right)+\omega\left(\begin{array}{c|c}
Y_{11} & Y_{12} \\
\hline{ }^{t} Y_{12} & Y_{22}
\end{array}\right)\right]^{-1}=\left(\begin{array}{c|c}
0 & 0 \\
\hline 0 & Y_{22}^{-1}
\end{array}\right)
$$

Interestingly this result puts in evidence that only the components of $\mathbb{Q}_{1}$ concerning $\underline{n} \otimes \underline{n}, \sqrt{2} \underline{m} \stackrel{s}{\otimes} \underline{n}$ and $\sqrt{2} \underline{n} \stackrel{s}{\otimes} \underline{\ell}$ are needed in this limit, which is consistently equivalent to the existence of $\boldsymbol{B}$ in (30). In other words, the limit (34) is calculated by keeping only the submatrix $Y_{22}$ of $\mathbb{Q}_{1}$ in $\mathcal{B}^{*}$ (or alternatively the central block surrounded by dashed lines in the matrix of $\mathbb{Q}_{1}$ in $\mathcal{B}$ as shown in (B.5)). In general the fourth-order compliance contribution tensor and eventually the second-order crack opening displacement tensor may be numerically estimated (see a strategy developed in [50]) if not analytically available.

In addition it is also worth noting that if the planes normal to $\underline{\ell}, \underline{m}$ and $\underline{n}$ are material symmetry planes, the matrix $Y_{22}$ is expected to be diagonal, which also corresponds to a diagonal $\overline{\boldsymbol{B}}$ tensor

$$
\begin{equation*}
\boldsymbol{B}=B_{n n} \underline{n} \otimes \underline{n}+B_{m m} \underline{m} \otimes \underline{m}+B_{\ell \ell} \underline{\ell} \otimes \underline{\ell} \tag{35}
\end{equation*}
$$

In this case and only in this case where $\boldsymbol{B}$ is diagonal as in (35), the correspondence between the components of $\boldsymbol{B}$ and those of $\mathbb{Q}_{1}$ in the frame $(\underline{\ell}, \underline{m}, \underline{n})$

$$
\begin{equation*}
B_{n n}=\frac{4}{3} \frac{1}{\left(Q_{1}\right)_{n n n n}} \quad ; \quad B_{m m}=\frac{4}{3} \frac{1}{\left(Q_{1}\right)_{m n n n}} \quad ; \quad B_{\ell \ell}=\frac{4}{3} \frac{1}{\left(Q_{1}\right)_{n e n \ell}} \tag{36}
\end{equation*}
$$

In the most general case of anisotropy and arbitrary orientation of the crack, the principal directions of $\boldsymbol{B}$ may not be aligned with the axes of the crack. Another interesting issue concerning $\boldsymbol{B}$ is its dependence or not on the crack orientation. It has been shown for example in the framework of 2D orthotropy in [55] that $\boldsymbol{B}$ is not correlated to the crack orientation. Besides a numerical calculation has been exploited in [26] to check the validity of this result in 3D: it comes out that the dependence of $\boldsymbol{B}$ on the crack orientation remains weak in the case of an EO matrix. This result can be reconsidered with the following result providing an analytical expression of $\boldsymbol{B}$ in an EO matrix.

## 4. Compliance contribution and opening displacement tensors of a crack embedded in an EO matrix

### 4.1. Derivation from the transformation method

This section develops the methodology to build the crack contribution tensor in an EO matrix from that of a transformed crack in an associated isotropic matrix.

As shown in the literature ([48], [15], [53]), [49], [50], [41]), the effect of an open crack in the compliance of the infinite medium in which it is embedded relies on the singularity of $\mathbb{Q}$ when $\omega$ is set to 0 and, as recalled in section 3, the relevant crack contribution is obtained from the limit (30). The calculation of the fourth-order compliance contribution tensor (30) can be obtained by observing that the inverse of the transformation put in evidence in (23) leads to

$$
\begin{equation*}
\omega \mathbb{Q}^{-1}=(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}):\left[\omega \tilde{\mathbb{Q}}^{-1}\right]:(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}) \tag{37}
\end{equation*}
$$

and gives the limit

$$
\begin{equation*}
\mathbb{H}=\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1}=(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}):\left[\lim _{\omega \rightarrow 0} \omega \tilde{\mathbb{Q}}^{-1}\right]:(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}) \tag{38}
\end{equation*}
$$

Indeed the calculation of $\tilde{\mathbb{Q}}$ in the right hand side of (38) is simplified by the fact that it corresponds to an isotropic matrix. However the limit involving $\tilde{\mathbb{Q}}$ does not actually represent the crack compliance tensor in the transformed configuration insofar as the aspect ratio $\omega$ is not the aspect ratio of the transformed ellipsoid. As recalled in (22), this transformed ellipsoid is characterized by the tensor $\tilde{\boldsymbol{A}}=\boldsymbol{A} \cdot \boldsymbol{\Phi}$. Hence, using (20), this tensor asymptotically defines a crack since

$$
\begin{equation*}
{ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}=(\boldsymbol{\Phi} \cdot \underline{\ell}) \otimes(\boldsymbol{\Phi} \cdot \underline{\ell})+\eta^{2}(\boldsymbol{\Phi} \cdot \underline{m}) \otimes(\boldsymbol{\Phi} \cdot \underline{m})+\omega^{2}(\boldsymbol{\Phi} \cdot \underline{n}) \otimes(\boldsymbol{\Phi} \cdot \underline{n}) \tag{39}
\end{equation*}
$$

tends towards a tensor of rank 2 when $\omega$ tends towards 0 . However since $\boldsymbol{\Phi}$ is a priori not isometric, $\omega$ does not correspond to the ratio between the lower and greater eigenvalues of ${ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}$. The right infinitesimal aspect ratio governed by $\tilde{\boldsymbol{A}}$ can be obtained by means of the algorithm developed herebelow.

1. First $\lim _{\omega \rightarrow 0}{ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}$ is diagonalized as

$$
\begin{equation*}
\lim _{\omega \rightarrow 0}{ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}=(\boldsymbol{\Phi} \cdot \underline{\ell}) \otimes(\boldsymbol{\Phi} \cdot \underline{\ell})+\eta^{2}(\boldsymbol{\Phi} \cdot \underline{m}) \otimes(\boldsymbol{\Phi} \cdot \underline{m})=\tilde{a}^{2} \underline{\tilde{\varepsilon}} \otimes \underline{\tilde{\varepsilon}}+\tilde{b}^{2} \underline{\tilde{m}} \otimes \underline{\tilde{m}} \tag{40}
\end{equation*}
$$

where $\tilde{a}^{2}, \tilde{b}^{2}(0 \leq \tilde{b} \leq \tilde{a})$ and 0 are the eigenvalues associated to the orthonormal eigenvectors $\underline{\tilde{\ell}}, \underline{\tilde{m}}$ and $\underline{\tilde{n}}$.
2. The direction $\underline{\tilde{n}}$ is obviously normal to the transformed crack but is not necessarily oriented along $\boldsymbol{\Phi} \cdot \underline{n}$. Nevertheless this last vector can be decomposed as

$$
\begin{equation*}
\boldsymbol{\Phi} \cdot \underline{n}=\tilde{\gamma} \underline{\tilde{n}}+\tilde{w}_{m} \underline{\tilde{m}}+\tilde{w}_{\ell} \underline{\tilde{\ell}} \quad \text { with } \quad \tilde{w}_{m}=\underline{\tilde{m}} \cdot \boldsymbol{\Phi} \cdot \underline{n}, \quad \tilde{w}_{\ell}=\underline{\tilde{\varepsilon}} \cdot \boldsymbol{\Phi} \cdot \underline{n}, \quad \tilde{\gamma}=\left\|\boldsymbol{\Phi} \cdot \underline{n}-\tilde{w}_{m} \underline{\tilde{m}}-\tilde{w}_{\ell} \underline{\tilde{\ell}}\right\| \tag{41}
\end{equation*}
$$

where $\underline{\tilde{n}}$ and $\tilde{\gamma}$ (necessarily non-zero since $\boldsymbol{\Phi}$ is inversible) also satisfy

$$
\begin{equation*}
\underline{\tilde{n}}=\frac{1}{\tilde{\gamma}}\left(\boldsymbol{\Phi} \cdot \underline{n}-\tilde{w}_{m} \underline{\tilde{m}}-\tilde{w}_{\ell} \underline{\tilde{\underline{\ell}}}\right) \quad \text { and } \quad \tilde{\gamma}=\underline{\tilde{n}} \cdot \boldsymbol{\Phi} \cdot \underline{n} \tag{42}
\end{equation*}
$$

Note that the unit eigenvectors of the symmetric tensor (40) can be changed by their opposite vectors so there is no inconsistency to define $\underline{\tilde{n}}$ as in (42) and $\underline{\tilde{\ell}}$ and $\underline{\tilde{m}}$ such that $(\underline{\tilde{\ell}}, \underline{\tilde{m}}, \underline{\tilde{n}})$ forms an orthonormal frame of positive orientation.
3. Inserting (40) and (41) in (39) yields

$$
\begin{equation*}
{ }^{t} \tilde{\boldsymbol{A}} \cdot \underset{\omega \rightarrow 0}{\sim} \tilde{a}^{2} \underline{\tilde{\varepsilon}} \otimes \underline{\tilde{e}}+\tilde{b}^{2} \underline{\tilde{m}} \otimes \underline{\tilde{m}}+\omega^{2} \tilde{\gamma}^{2} \underline{\tilde{n}} \otimes \underline{\tilde{n}}+\omega^{2} \Delta \tag{43}
\end{equation*}
$$

where

$$
\begin{equation*}
\Delta=\tilde{\gamma} \underline{\tilde{n}} \otimes\left(\tilde{w}_{\ell} \underline{\tilde{\ell}}+\tilde{w}_{m} \underline{\tilde{m}}\right)+\tilde{\gamma}\left(\tilde{w}_{\ell} \underline{\tilde{\varepsilon}}+\tilde{w}_{m} \underline{\tilde{m}}\right) \otimes \underline{\tilde{n}}+\left(\tilde{w}_{\ell} \underline{\tilde{\varepsilon}}+\tilde{w}_{m} \underline{\tilde{m}}\right) \otimes\left(\tilde{w}_{\ell} \underline{\tilde{\ell}}+\tilde{w}_{m} \underline{\tilde{m}}\right) \tag{44}
\end{equation*}
$$

Now it makes no doubt that the tensor $\boldsymbol{\Delta}$ does not play any role in the definition of the asymptotic crack defined by $\tilde{\boldsymbol{A}}$ and the aspect ratios asymptotically associated to $\tilde{\boldsymbol{A}}$ are

$$
\begin{equation*}
\tilde{\eta}=\frac{\tilde{b}}{\tilde{a}} \quad \text { and } \quad \tilde{\omega}=\omega \frac{\tilde{\gamma}}{\tilde{a}} \tag{45}
\end{equation*}
$$

4. Finally the actual transformation of crack compliance writes

$$
\begin{equation*}
\mathbb{H}=\frac{\tilde{a}}{\tilde{\gamma}}(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}): \tilde{H}:(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}) \quad \text { with } \quad \mathbb{H}=\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1} \quad \text { and } \quad \tilde{H}=\lim _{\tilde{\omega} \rightarrow 0} \tilde{\omega} \tilde{\mathbb{Q}}^{-1} \tag{46}
\end{equation*}
$$

which puts in evidence the correction factor $\frac{\tilde{\tilde{\gamma}}}{\tilde{\gamma}}$ and where the crack compliance appearing in the right hand side $\tilde{H}$ now actually corresponds to the crack defined by $\tilde{\boldsymbol{A}}$ embedded in an isotropic matrix (see Appendix C for practical calculation of this term). Note that $\tilde{A}$ can be replaced in (46) by the equivalent normalized asymptotic expression

$$
\begin{equation*}
\tilde{\boldsymbol{A}} \rightarrow \underline{\tilde{\varepsilon}} \otimes \underline{\tilde{\ell}}+\tilde{\eta} \underline{\tilde{m}} \otimes \underline{\tilde{m}}+\tilde{\omega} \underline{\tilde{n}} \otimes \underline{\tilde{n}} \tag{47}
\end{equation*}
$$

5. The result (46) can conveniently be transformed into a relationship between crack opening displacement tensors thanks to the identity (30). For this purpose it is worth observing from a contraction of (40) to the left and to the right by $\underline{\tilde{n}}$ that

$$
\begin{equation*}
(\underline{\tilde{n}} \cdot \boldsymbol{\Phi} \cdot \underline{\ell})^{2}+\eta^{2}(\underline{\tilde{n}} \cdot \boldsymbol{\Phi} \cdot \underline{m})^{2}=0 \quad \Rightarrow \quad \underline{\tilde{n}} \cdot \boldsymbol{\Phi} \cdot \underline{\ell}=\underline{\tilde{n}} \cdot \boldsymbol{\Phi} \cdot \underline{m}=0 \tag{48}
\end{equation*}
$$

which means by symmetry of $\boldsymbol{\Phi}$ that $\boldsymbol{\Phi} \cdot \underline{\tilde{n}}$ is colinear to $\underline{n}$ and thus writes by consistency with (42)

$$
\begin{equation*}
\boldsymbol{\Phi} \cdot \underline{\tilde{n}}=\tilde{\gamma} \underline{n} \tag{49}
\end{equation*}
$$

It may be interesting to note here that the normal of the transformed crack $\underline{\tilde{n}}$ can be directly obtained without requiring to calculate $\underline{\tilde{\ell}}$ and $\underline{\tilde{m}}$ by

$$
\begin{equation*}
\underline{\tilde{n}}=\frac{\boldsymbol{\Phi}^{-1} \cdot \underline{n}}{\left\|\boldsymbol{\Phi}^{-1} \cdot \underline{n}\right\|}=\frac{\boldsymbol{\Theta} \cdot \underline{n}}{\|\boldsymbol{\Theta} \cdot \underline{n}\|} \tag{50}
\end{equation*}
$$

Introducing $\tilde{\boldsymbol{B}}$ associated to $\lim _{\tilde{\omega} \rightarrow 0} \tilde{\omega} \tilde{\mathbb{Q}}^{-1}$ by (30) and calculable by following (Appendix C ) since $\tilde{\mathbb{C}}$ is isotropic, it comes that (46) yields, thanks to (49)

$$
\begin{equation*}
\left.\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1}=\frac{3}{4} \tilde{a} \tilde{\gamma} \underline{n} \stackrel{s}{\otimes}(\boldsymbol{\Phi} \cdot \tilde{\boldsymbol{B}} \cdot \boldsymbol{\Phi})\right)^{s} \underline{n} \tag{51}
\end{equation*}
$$

which finally implies

$$
\begin{equation*}
\boldsymbol{B}=\tilde{a} \tilde{\gamma} \boldsymbol{\Phi} \cdot \tilde{\boldsymbol{B}} \cdot \boldsymbol{\Phi} \tag{52}
\end{equation*}
$$

Note that a relationship between parameters can be obtained by observing that the determinants of (39) and (43) are identical. Indeed using $\operatorname{det} \boldsymbol{\Phi}=1$ implying that $\operatorname{det}\left({ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}\right)=\operatorname{det}\left({ }^{t} \boldsymbol{A} \cdot \boldsymbol{A}\right)$ and keeping the predominant terms in $\omega$ of the determinant of (43), it comes out that

$$
\begin{equation*}
\operatorname{det}\left({ }^{t} \boldsymbol{A} \cdot \boldsymbol{A}\right)=\eta^{2} \omega^{2} \quad \text { and } \quad \operatorname{det}\left({ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}\right)=\tilde{a}^{2} \tilde{b}^{2} \tilde{\gamma}^{2} \omega^{2} \quad \Rightarrow \quad \tilde{a} \tilde{b} \tilde{\gamma}=\eta \tag{53}
\end{equation*}
$$

So (52) alternatively writes

$$
\begin{equation*}
\boldsymbol{B}=\frac{\eta}{\tilde{b}} \boldsymbol{\Phi} \cdot \tilde{\boldsymbol{B}} \cdot \boldsymbol{\Phi} \tag{54}
\end{equation*}
$$

The hereabove algorithm allows the derivation of the second-order opening displacement tensor of an elliptical crack arbitrarily oriented in an EO matrix from an associated problem of a transformed crack in an adequate isotropic matrix. A particular attention must be paid to the fact that $\boldsymbol{\Phi}$ does not directly apply as the transformation between crack opening displacement tensors in (52): indeed a mutiplicative correction must be considered for $\boldsymbol{B}$. One of the major interest of this calculation is that it provides the compliance effect of a crack which is not particularly aligned in some symmetry plane of the anisotropic matrix. Although the EO behavior does not actually cover the whole range of possible anisotropy, it has been shown in [33] and [34] that it could accurately approximate certain orthotropic materials. So the present methodology can be used to approximate the compliance contribution tensor of a crack in such a material whatever the relative orientation of the crack with respect to the matrix symmetry planes.

Before considering specific analytical cases, it is worth commenting the general structure of $\boldsymbol{B}$ in (52). First it is shown in (Appendix C) that $\tilde{\boldsymbol{B}}$ is diagonal in the frame of the transformed crack

$$
\begin{equation*}
\tilde{\boldsymbol{B}}=\tilde{B}_{n n} \underline{\tilde{\tilde{}}} \otimes \underline{\tilde{n}}+\tilde{B}_{m m} \underline{\tilde{\underline{m}}} \otimes \underline{\tilde{\tilde{m}}}+\tilde{B}_{\ell \ell} \underline{\tilde{\tilde{E}}} \otimes \underline{\tilde{\tilde{E}}} \tag{55}
\end{equation*}
$$

Hence, thanks to (52) and (49), $\boldsymbol{B}$ writes

$$
\begin{equation*}
\boldsymbol{B}=\tilde{a} \tilde{\gamma}\left(\tilde{\gamma}^{2} \tilde{B}_{n n} \underline{n} \otimes \underline{n}+\tilde{B}_{m m}(\boldsymbol{\Phi} \cdot \underline{\tilde{m}}) \otimes(\boldsymbol{\Phi} \cdot \underline{\tilde{m}})+\tilde{B}_{\ell \ell}(\boldsymbol{\Phi} \cdot \underline{\tilde{\varepsilon}}) \otimes(\boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})\right) \tag{56}
\end{equation*}
$$

In the general case of arbitrary orientations of the crack and the matrix anisotropy ( $\boldsymbol{D}$ tensor), neither $\boldsymbol{\Phi} \cdot \tilde{m}$ nor $\boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}$ are a priori aligned with any principal direction of the crack and (41) highlights that these vectors may have a nonzero component on $\underline{n}$. The components of $\boldsymbol{B}$ including off-diagonal terms can be expressed in the principal axes of the crack

$$
\left\{\begin{align*}
B_{\ell \ell} & =\tilde{a} \tilde{\gamma}\left(\tilde{B}_{m m}(\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})^{2}+\tilde{B}_{\ell \ell}(\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})^{2}\right)  \tag{57a}\\
B_{m m} & =\tilde{a} \tilde{\gamma}\left(\tilde{B}_{m m}(\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})^{2}+\tilde{B}_{\ell \ell}(\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})^{2}\right) \\
B_{n n} & =\tilde{a} \tilde{\gamma}\left(\tilde{\gamma}^{2} \tilde{B}_{n n}+\tilde{B}_{m m}(\underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})^{2}+\tilde{B}_{\ell \ell}(\underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})^{2}\right) \\
B_{m n}=B_{n m} & =\tilde{a} \tilde{\gamma}\left(\tilde{B}_{m m}(\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})(\underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})+\tilde{B}_{\ell \ell}(\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})(\underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\theta}})\right) \\
B_{n \ell}=B_{\ell n} & =\tilde{a} \tilde{\gamma}\left(\tilde{B}_{m m}(\underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})(\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})+\tilde{B}_{\ell \ell}(\underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})(\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})\right) \\
B_{\ell m}=B_{m \ell} & =\tilde{a} \tilde{\gamma}\left(\tilde{B}_{m m}(\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})(\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})+\tilde{B}_{\ell \ell}(\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})(\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\theta}})\right)
\end{align*}\right.
$$

Depending on the orientations of $\boldsymbol{\Phi}$ (i.e. of $\boldsymbol{D}$ ) and the crack shape and direction, the terms of the type $\underline{u} \cdot \boldsymbol{\Phi} \cdot \underline{v}$ appearing in (57a)-(57f) can take non-zero values. Besides particular cases, the principal axes of the crack are not eigenvectors of $\boldsymbol{B}$, which produces possible couplings between normal and shear modes. In fact it is possible to show that a necessary and sufficient condition to cancel out the couplings between the normal mode and the shear modes (i.e. $B_{m n}=B_{n \ell}=0$ ) is that the crack normal $\underline{n}$ is an eigenvector of $\boldsymbol{D}($ or $\boldsymbol{\Phi})$ or in other words the crack plane is a symmetry plane of the matrix behavior, whatever the orientation of the in-plane principal axes of the crack.

- Sufficient condition

If $\underline{n}$ is an eigenvector of $\boldsymbol{\Phi}$ then (49) ensures that $\underline{\tilde{n}}=\underline{\sim} \underline{n}$ and $\tilde{\gamma}$ is one of the parameters $1 / \sqrt{d_{i}}$. In addition the crack plane spanned by $\underline{\ell}$ and $\underline{m}$ is stable by $\boldsymbol{\Phi}$ and $\underline{\underline{\ell}}$ and $\underline{\tilde{m}}$ also lie in this plane. It follows that $\underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}}$ and $\underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}$ are both zero and so are $B_{m n}$ in (57d) and $B_{n \ell}$ in $(57 \mathrm{e})$.

- Necessary condition

Reciprocally, it is assumed that $B_{m n}=B_{n \ell}=0$. Recalling that $\tilde{a} \tilde{\gamma}$ is not zero, (57d) and (57e) imply the following linear system

$$
\left(\begin{array}{cc}
\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{n}} & \underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}  \tag{58}\\
\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}} & \underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}
\end{array}\right)\binom{\tilde{B}_{m m} \underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\tilde{m}}}}{\tilde{B}_{\ell \ell} \underline{n} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}}=\binom{0}{0}
$$

The inversibility of the $2 \times 2$ matrix involved in (58) can be analyzed by introducing its determinant

$$
\begin{equation*}
\Delta_{1}=(\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})(\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})-(\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}})(\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}}) \tag{59}
\end{equation*}
$$

A new system can be formed by putting together this equation (59) with that obtained by contraction of (40) to the left by $\underline{\tilde{\ell}}$ and to the right by $\underline{\tilde{m}}$

$$
\left(\begin{array}{cc}
\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}} & -\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}}  \tag{60}\\
\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}} & \eta^{2} \underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}}
\end{array}\right)\binom{\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}}{\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}}=\binom{\Delta_{1}}{0}
$$

of determinant

$$
\begin{equation*}
\Delta_{2}=\eta^{2}(\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})^{2}+(\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}})^{2} \tag{61}
\end{equation*}
$$

The $2 \times 2$ matrix of (60) is necessarily inversible. Indeed the cancellation of $\Delta_{2}$ would imply that $\boldsymbol{\Phi} \cdot \underline{\tilde{m}}$ be orthogonal to both $\underline{\ell}$ and $\underline{m}$ and thus colinear to $\underline{n}$, which would entail a linear dependance between $\underline{\tilde{m}}$ and $\underline{\tilde{n}}$ resulting from (49) and the inversibility of $\boldsymbol{\Phi}$. The same reasoning applied on $\boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}$ shows that the vector of the left hand side of (60) is not zero. It follows that the right hand side of (60) and thus $\Delta_{1}$ cannot cancel out. This means that the $2 \times 2$ matrix involved in (58) is inversible and, as a consequence, since $\tilde{B}_{m m}$ and $\tilde{B}_{\ell \ell}$ are stricly positive, $\boldsymbol{\Phi} \cdot \underline{n}$ is orthogonal to both $\underline{\ell}$ and $\underline{m}$ and thus colinear to $\underline{\tilde{n}}$, which also implies $\boldsymbol{\Phi} \cdot \underline{n}=\tilde{\gamma} \underline{\tilde{n}}$ by consistency with (42). Invoking the relationship (49) finally leads to the sought result $\boldsymbol{\Phi}^{2} \cdot \underline{n}=\boldsymbol{D} \cdot \underline{n}=\tilde{\gamma}^{2} \underline{n}$.

The coupling between shear modes (i.e. $B_{\ell m}$ ) can also be analyzed. If the principal axes of the crack are aligned with those of $\boldsymbol{D}$, then (40) implies that $\tilde{\boldsymbol{\ell}}$ and $\tilde{\boldsymbol{m}}$ are respectively equal to $\boldsymbol{\ell}$ and $\boldsymbol{m}$ or $\boldsymbol{m}$ and $\boldsymbol{\ell}$ depending on the order of the respective eigenvalues and $\eta$, which means that either $\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}}=\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}=0$ or $\underline{m} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{m}}=\underline{\ell} \cdot \boldsymbol{\Phi} \cdot \underline{\tilde{\ell}}=0$. Hence it results from (57f) that in any case $B_{\ell m}=0$. The reciprocal assertion is not true. Indeed it is easy to find a set of parameters of the matrix behavior $\left(d_{1}, d_{2}, d_{3}, v\right)$ and crack shape and orientation $(\eta, \theta, \phi, \psi)$ which allows to cancel out $B_{\ell m}=0$ without alignment of the principal axes of the crack with those of $\boldsymbol{D}$. Indeed examples in Figures 7a and 7b in section 5.3 representing the components of $\boldsymbol{B}$ in the local crack frame against the angle $\phi$ (see angles in Figure 1b), for given parameters $d_{1}, d_{2}, d_{3}, v, \eta, \theta$, and $\psi$ indicated in the caption, shows that there exists an intermediary value of $\phi$ such that $B_{\ell m}=0$. In fact it is even possible to cancel out any other off-diagonal components namely $B_{m n}=0$ or $B_{n \ell}=0$ but these conditions are obtained for different values of $\phi$ since the choice of $\theta \neq 0$ prevents $\underline{n}$ from being aligned with one of the principal directions of $\boldsymbol{B}$ and thus $B_{m n}$ and $B_{n \ell}$ cannot simultaneously vanish by virtue of the previous demonstration.

The $\boldsymbol{B}$ tensor (56) can also be decomposed in the principal axes of the matrix (the superscript ${ }^{D}$ is used to denote the component in this frame and can be withdrawn if the principal axes of $\boldsymbol{D}$ are chosen as the canonical axes)

$$
\begin{equation*}
B_{i j}^{D}=\underline{e}_{i}^{D} \cdot \boldsymbol{B} \cdot \underline{e}_{j}^{D}=\tilde{a} \tilde{\gamma}\left(\tilde{\gamma}^{2} \tilde{B}_{n n} n_{i}^{D} n_{j}^{D}+\tilde{B}_{m m} \frac{\tilde{m}_{i}^{D} \tilde{m}_{j}^{D}}{\sqrt{d_{i} d_{j}}}+\tilde{B}_{\ell \ell} \frac{\tilde{\ell}_{i}^{D} \tilde{\ell}_{j}^{D}}{\sqrt{d_{i} d_{j}}}\right) \tag{62}
\end{equation*}
$$

If the crack is arbitrarily oriented, these components may all take non-zero values.

### 4.2. Approximation by the compliance contribution tensor of an ellipsoid with finite aspect ratio

The previous sections have put in evidence the interest of the crack compliance tensor defined as the limit (30) and the strategy to calculate it for an EO matrix. As already mentioned, the reasoning is based on the description of the crack as an ellipsoid for which the aspect ratio tends towards 0 . However it may be interesting to raise the issue of the relevance of the replacement of the limit (30) by the compliance tensor of finite aspect ratio or, in other words, the issue about the existence of a threshold below which a flat ellipsoid could be considered as a crack allowing the use of the crack compliance or opening displacement tensor. The idea is then in fact to reach a given tolerance on the relative error between the crack compliance tensor $\mathbb{H}$ and the tensor $\omega \mathbb{Q}^{-\mathbb{1}}$ for a sufficiently small aspect ratio $\omega$. This question is of crucial importance in order to decide whether a flat pore can practically and mathematically be assimilated to a crack in terms of compliance contribution, depending on the anisotropy of the matrix and on the planar shape of the crack (parameter $\eta$ ). However a satisfactory answer may not be as easy to bring since the relative error can be calculated componentwise relatively to a given frame and each component may have a different Taylor expansion when $\omega$ tends towards 0

$$
\begin{equation*}
\epsilon_{i j k l}(\omega)=\frac{\left(\omega \mathbb{Q}^{-1}\right)_{i j k l}-H_{i j k l}}{H_{i j k l}}=\rho_{i j k l} \omega+O\left(\omega^{2}\right) \tag{63}
\end{equation*}
$$

The existence of a universal threshold may be questioned if the error depends on the component. The case of an isotropic matrix leading to analytical expressions of $\rho_{i j k l}$ and that of an EO matrix are successively examined.

In the case of an isotropic matrix, the second Hill tensor can be found in the literature (see [41] or [33]) and the expression of $\mathbb{H}$ is recalled in (C.19) so that their relevant components in the crack frame (nnnn, mnmn, nौn८) are plotted against the aspect ratio $\omega$ in Figure 2a for $v=0.2$ and $\eta=0.1$ as well as $\eta=1$. The corresponding relative errors $\epsilon_{n n n n}, \epsilon_{m n m n}$ and $\epsilon_{n \ell n}$ are plotted against the aspect ratio $\omega$ in Figure 2 b . Moreover the Taylor expansions of these relative errors in the vicinity of $\omega=0$ are determined by the coefficients $\rho_{i j k l}$ in the crack frame (63) which are given by

$$
\left\{\begin{array}{l}
\rho_{n n n n}=\frac{\mathcal{G}^{2}+2 v\left(3-4 v^{2}\right) \eta^{2} \mathcal{G} \mathcal{H}+\eta^{4} \mathcal{H}^{2}}{2\left(1-v^{2}\right) \eta\left(\mathcal{G}+\eta^{2} \mathcal{H}\right)} \quad\left(\underset{\eta \rightarrow 1}{\rightarrow} \frac{\pi(1+2 v)^{2}}{8(1+v)}\right)  \tag{64a}\\
\rho_{\text {mnmn }}=\frac{2+(1-v) \eta^{2}}{\eta\left(\mathcal{G}+(1-v) \eta^{2} \mathcal{H}\right)} \quad\left(\underset{\eta \rightarrow 1}{\rightarrow} \frac{4(3-v)}{\pi(2-v)}\right) \\
\rho_{n \ell n \ell}=\frac{1-v+2 \eta^{2}}{\eta\left((1-v) \mathcal{G}+\eta^{2} \mathcal{H}\right)} \quad\left(\underset{\eta \rightarrow 1}{\left.\rightarrow \frac{4(3-v)}{\pi(2-v)}\right)}\right.
\end{array}\right.
$$

where $\mathcal{G}$ and $\mathcal{H}$ defined in (C.16) are functions of $\eta$ and of the complete elliptic integrals $\mathcal{K}=\mathcal{K}\left(\sqrt{1-\eta^{2}}\right)$ and $\mathcal{E}=\mathcal{E}\left(\sqrt{1-\eta^{2}}\right)$. These coefficients $\rho_{n n n n}, \rho_{m n m n}$ and $\rho_{n e n t}$ are plotted against the shape parameter $\eta$ for $v=0.2$ in Figure 2c. The expressions (64a), (64b) and (64c) and Figures 2 b and 2 c clearly highlight that the level of relative error depends on the shape of the crack (parameter $\eta$ ) and on the component of $H$ under consideration (tensile or shear effect). As a consequence, as obviously deduced from Figure $2 b$, the threshold on $\omega$ that is required to reach a given error is not universal. For instance an error of less than $1 \%$ can be obtained for $\omega<0.016$ for the tensile compliance $H_{n n n n}$ but $\omega<0.005$ is necessary to comply with this error condition for the shear compliance $H_{m n m n}=H_{n e n t}$ when $\eta=1$ (circular crack). In addition these shear compliances are affected by different levels of errors when the crack is not circular anymore as demonstrated by Figure 2c.

Whereas the isotropic matrix does not allow to identify a universal relevant threshold on the aspect ratio, it is obviously expected that the same conclusion shall hold in presence of an EO matrix. However the issue of the relationships between errors of approximation made on the problem of a crack in an EO matrix and their counterparts in the associated transformed isotropic problem can be raised.
The relevant relationship between the transformed compliance contribution tensors corresponding to ellipsoids of finite aspect ratio is obtained by combining (37) and (45) (which is only asymptotically valid in the vicinity of $\omega=0$ ) so that

$$
\begin{equation*}
\omega \mathbb{Q}^{-1} \approx \frac{\tilde{a}}{\tilde{\gamma}}(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}):\left[\tilde{\omega} \tilde{\mathbb{Q}}^{-1}\right]:(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}) \tag{65}
\end{equation*}
$$

and the difference with the limit (46) is

$$
\begin{equation*}
\omega \mathbb{Q}^{-1}-\mathbb{H} \approx \frac{\tilde{a}}{\tilde{\gamma}}(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}):\left[\tilde{\omega} \tilde{\mathbb{Q}}^{-1}-\tilde{H}\right]:(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}) \tag{66}
\end{equation*}
$$

The relationship (66) shows that the components in an arbitrary frame of the difference between the crack compliance tensor and its approximation by the compliance contribution tensor of a flattening ellipsoid can be written as linear combinations of their transformed counterparts in the isotropic matrix. As a consequence, since these components in the isotropic matrix do not share the same decreasing error when the aspect ratio tends towards 0 , it may be generally difficult to relate the trends of the errors in the EO problem to those in the transformed isotropic one. An example of comparison between errors is shown in Figure 3a: no analogy can be deduced between the trends of errors of transformed problem even if the transformed aspect ratio (45) is taken into account. On the contrary, if the components of (66) are considered in the principal axes $\underline{e}_{i}^{D}$ of $\boldsymbol{D}$ (the superscript ${ }^{D}$ is used to denote the component in this frame), then a direct correspondence between the error components in the EO and those in the isotropic problems comes out under the condition that the aspect ratio in the isotropic problem is rescaled as in (45) when $\omega$ tends towards 0

$$
\begin{equation*}
\left(\omega \mathbb{Q}^{-1}-\mathbb{H}\right)_{i j k l}^{D} \approx \frac{\tilde{a}}{\tilde{\gamma}} \frac{\left(\tilde{\omega} \tilde{\mathbb{Q}}^{-1}-\tilde{H}\right)_{i j k l}^{D}}{\sqrt{d_{i} d_{j} d_{k} d_{l}}} \quad, \quad H_{i j k l}^{D}=\frac{\tilde{a}}{\tilde{\gamma}} \frac{\tilde{H}_{i j k l}^{D}}{\sqrt{d_{i} d_{j} d_{k} d_{l}}} \quad \text { and } \quad \epsilon_{i j k l}^{D}(\omega) \approx \tilde{\epsilon}_{i j k l}^{D}(\tilde{\omega}) \tag{67}
\end{equation*}
$$


(a) Components of the compliance contribution tensor of an ellipsoid and limits for a crack

(b) Relative errors

(c) Leading coefficients

Figure 2: Approximation of the crack compliance tensor $\mathbb{H}$ by the compliance tensor of an an ellipsoid with finite aspect ratio $\omega$ - case of an isotropic matrix $(v=0.2)$

This result is clearly illustrated in Figure 3b where associated errors asymptotically follow the same trend when $\omega$ tends towards 0 provided that the aspect ratio in the isotropic problem is rescaled, which corresponds in the logarithmic graph of an horizontal translation from the dashed curves to the dotted ones. As a consequence any threshold $\tilde{\omega}^{*}$ of the aspect ratio in the associated isotropic problem is converted into a threshold of the aspect ratio $\omega^{*}$ of the EO problem corresponding to the same level of error such that

$$
\begin{equation*}
\omega^{*}=\tilde{\omega}^{*} \frac{\tilde{a}}{\tilde{\gamma}} \tag{68}
\end{equation*}
$$



Figure 3: Relative errors on the approximation of the crack compliance tensor H by the compliance tensor of an an ellipsoid with finite aspect ratio $\omega$ - case of an EO matrix ( $v=0.2$, eigenvalues $d_{1}=1 / 3, d_{2}=1 / 2, d_{3}=6$, eigenvectors $\underline{e}_{i}^{D}$ aligned with the canonical frame), and a circular crack ( $\eta=1$ ) oriented by the Euler angles $\theta=\pi / 3, \phi=\pi / 3, \psi=\pi / 3$ in (19a)-(19c))

## 5. Particular cases of crack opening displacement tensor in an EO matrix

In this section some illustrations of the $\boldsymbol{B}$ tensor of a crack in an EO matrix are proposed in the particular cases of a circular crack firstly parallel and secondly rotated with respect to a symmetry plane of the matrix. Then a more general case of crack shape and orientation is finally proposed.

### 5.1. Circular crack parallel to a symmetry plane of an EO matrix

The canonical frame $\left(\underline{e}_{i}\right)_{i=1,2,3}$ is chosen such that $\underline{n}=\underline{e}_{3}$ and $\boldsymbol{D}$ is diagonal in this frame so that

$$
\begin{equation*}
\boldsymbol{D}=\sum_{i=1}^{3} d_{i} \underline{e}_{i} \otimes \underline{e}_{i} \quad ; \quad \boldsymbol{\Theta}=\sum_{i=1}^{3} \sqrt{d_{i}} \underline{e}_{i} \otimes \underline{e}_{i} \quad ; \quad \boldsymbol{\Phi}=\sum_{i=1}^{3} \frac{1}{\sqrt{d}} \underline{e}_{i} \otimes \underline{e}_{i} \quad \text { with } \quad d_{1} d_{2} d_{3}=1 \tag{69}
\end{equation*}
$$

As the crack is circular there is actually no constraint about the choice of directions between $\underline{\ell}$ and $\underline{m}$ in the plane spanned by $\left\{\underline{e}_{1}, \underline{e}_{2}\right\}$. Without any loss of generality $\underline{e}_{1}$ and $\underline{e}_{2}$ are chosen so that $d_{2} \geq d_{1}$ and $\underline{\ell}$ and $\underline{m}$ such that $\underline{\ell}=\underline{e}_{1}$ and $\underline{m}=\underline{e}_{2}$.

The derivation of the algorithm developed in section 4 provides $\tilde{a}$ and $\tilde{b}$ from (40) and $\tilde{\eta}$ from (45)

$$
\begin{equation*}
\tilde{a}=\frac{1}{\sqrt{d_{1}}} \quad ; \quad \tilde{b}=\frac{\eta}{\sqrt{d_{2}}}=\frac{1}{\sqrt{d_{2}}} \Rightarrow \tilde{\eta}=\frac{\tilde{b}}{\tilde{a}}=\eta \sqrt{\frac{d_{1}}{d_{2}}}=\sqrt{\frac{d_{1}}{d_{2}}}=\left(\frac{E_{1}}{E_{2}}\right)^{\frac{1}{4}} \tag{70}
\end{equation*}
$$

The choice made to define the canonical frame in association to the condition $d_{2} \geq d_{1}$ allows to keep the same convention for the initial crack and the transformed one $(\underline{\tilde{\ell}}=\underline{\ell}, \underline{\tilde{m}}=\underline{m}$ and $\underline{\tilde{n}}=\underline{n})$ and ensures that $\tilde{\eta} \leq 1$. The aspect ratio $\tilde{\eta}$ of the transformed crack decreases as the in-plane anisotropy $d_{2} / d_{1}$ increases, the large axis being oriented along the most compliant direction and the small one along the stiffest direction.

As the directions $\underline{\tilde{\ell}}, \underline{\tilde{m}}$ and $\underline{\tilde{n}}$ as well as the aspect ratio $\tilde{\eta}$ of the transformed crack are known, the crack opening displacement tensor $\tilde{\boldsymbol{B}}(\tilde{\eta})$ of an elliptical crack in an isotropic matrix of Young modulus $E$ and Poisson ratio $v$ is fully
determined in Appendix C by the components $\tilde{B}_{33}=\tilde{B}_{n n}, \tilde{B}_{22}=\tilde{B}_{m m}$ and $\tilde{B}_{11}=\tilde{B}_{\ell \ell}$, in (C.20a), (C.20b) and (C.20c).
The parameter $\tilde{\gamma}$ defined in (42) is also readily obtained here as well as the correction factor $\tilde{a} \tilde{\gamma}$ in (52)

$$
\begin{equation*}
\tilde{\gamma}=\underline{\tilde{n}} \cdot \boldsymbol{\Phi} \cdot \underline{n}=\underline{e}_{3} \cdot \boldsymbol{\Phi} \cdot \underline{e}_{3}=\frac{1}{\sqrt{d_{3}}} \quad ; \quad \tilde{a} \tilde{\gamma}=\frac{1}{\sqrt{d_{1} d_{3}}}=\sqrt{d_{2}} \tag{71}
\end{equation*}
$$

It is now clear from (52) and (69) that the crack opening displacement tensor $\boldsymbol{B}$ of a circular crack aligned in a symmetry plane of an EO matrix is diagonalized in the canonical frame and its components are

$$
\left\{\begin{array}{l}
B_{33}=B_{n n}=\frac{\tilde{a} \tilde{\gamma}}{d_{3}} \tilde{B}_{n n}(\tilde{\eta})=\frac{8\left(1-v^{2}\right)}{3 E} \frac{\sqrt{d_{1}}}{d_{3}} \frac{1}{\tilde{\mathcal{E}}}  \tag{72a}\\
B_{22}=B_{m m}=\frac{\tilde{a} \tilde{\gamma}}{d_{2}} \tilde{B}_{m m}(\tilde{\eta})=\frac{8\left(1-v^{2}\right)}{3 E} \frac{\sqrt{d_{1}}}{d_{2}} \frac{d_{2}-d_{1}}{\left(d_{2}-(1-v) d_{1}\right) \tilde{\mathcal{E}}-v d_{1} \tilde{\mathcal{K}}} \\
B_{11}=B_{\ell \ell}=\frac{\tilde{a} \tilde{\gamma}}{d_{1}} \tilde{B}_{\ell \ell}(\tilde{\eta})=\frac{8\left(1-v^{2}\right)}{3 E} \frac{1}{\sqrt{d_{1}}} \frac{d_{2}-d_{1}}{\left((1-v) d_{2}-d_{1}\right) \tilde{\mathcal{E}}+v d_{1} \tilde{\mathcal{K}}}
\end{array}\right.
$$

where $\tilde{\mathcal{K}}=\mathcal{K}\left(\sqrt{1-\tilde{\eta}^{2}}\right)=\mathcal{K}\left(\sqrt{1-\sqrt{\frac{E_{1}}{E_{2}}}}\right)$ and $\tilde{\mathcal{E}}=\mathcal{E}\left(\sqrt{1-\tilde{\eta}^{2}}\right)=\mathcal{E}\left(\sqrt{1-\sqrt{\frac{E_{1}}{E_{2}}}}\right)$ are the complete elliptic of respectively the first and second kind (see [57]) applied on the transformed ellipse. Note that if $d_{2}=d_{1}$, the transformed crack is also circular $\left(\tilde{\eta}=1\right.$ in (70)) so that the components $\tilde{B}_{i i}(\tilde{\eta})$ in (72a), (72b) and (72c) shall be replaced by the limits (C.21).

It is proposed to examine hereafter the effect of in-plane anisotropy of the matrix on $\boldsymbol{B}$. To this end $d_{3}=1$ is chosen so that $E_{3}=E(11)$ and the in-plane anisotropy is controlled by the parameter $\delta=\frac{E_{2}}{E_{1}}=\left(\frac{d_{2}}{d_{1}}\right)^{2} \geq 1$ (implying that $d_{2}=1 / d_{1}=\delta^{1 / 4}$ since $d_{1} d_{2}=1 / d_{3}=1$ ). The evolution of the components $B_{i i}$ (normalized by $1 / E$ ) with respect to the anisotropy measure $\delta$ are presented in Figure 4 for various values of the Poisson ratio $v$.


Figure 4: Components of the crack opening displacement tensor of a circular crack aligned in a symmetry plane of an EO matrix

The initial values at $\delta=1$ correspond to the case of an isotropic matrix and are given in (C.21). As already known from [53], all the components are equal if $v=0$ and $\delta=1$ and the discrepancy between $B_{33}$ and the other ones
increases with $v$. When the anisotropy parameter $\delta$ increases, the normal compliance $B_{33}$ slightly decreases so the anisotropy tends to stiffen the crack as regards the opening mode whereas $E_{3}$ remains constant. As expected the compliance in shear mode in the direction of higher stiffness (i.e. $B_{22}$ ) is also reduced with increasing $\delta$. On the contrary the compliance in shear mode $B_{11}$ increases.

### 5.2. Circular crack rotated with respect to a symmetry plane of an EO matrix

In this example, the canonical frame $\left(\underline{e}_{i}\right)_{i=1,2,3}$ is still defined by the principal axes of $\boldsymbol{D}\left(\underline{e}_{i}^{D}=\underline{e}_{i}\right)$. The crack shape is circular and the crack normal $\underline{n}$ is obtained from $\underline{e}_{3}$ by rotation of angle $\theta$ around $\underline{e}_{2}$ so that

$$
\left\{\begin{array} { l } 
{ \underline { \ell } = \operatorname { c o s } \theta \underline { e } _ { 1 } - \operatorname { s i n } \theta \underline { e } _ { 3 } }  \tag{73}\\
{ \underline { m } = \underline { e } _ { 2 } } \\
{ \underline { n } = \operatorname { s i n } \theta \underline { e } _ { 1 } + \operatorname { c o s } \theta \underline { e } _ { 3 } }
\end{array} \Leftrightarrow \left\{\begin{array}{l}
\underline{e}_{1}=\cos \theta \underline{\ell}+\sin \theta \underline{n} \\
\underline{e}_{2}=\underline{m} \\
\underline{e}_{3}=-\sin \theta \underline{\ell}+\cos \theta \underline{n}
\end{array} \quad \text { and } \boldsymbol{\Phi}=\sum_{i=1}^{3} \frac{1}{\sqrt{d_{i}}} e_{i} \otimes \underline{e}_{i}\right.\right.
$$

As the crack is circular the tensor $\boldsymbol{A}$ for $\omega=0$ can be written $\lim _{\omega \rightarrow 0} \boldsymbol{A}=\underline{\ell} \otimes \underline{\ell}+\underline{m} \otimes \underline{m}$ and (40) defining the transformed crack becomes here

$$
\begin{equation*}
\lim _{\omega \rightarrow 0}{ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}=\frac{1}{d_{2}} \underline{e}_{2} \otimes \underline{e}_{2}+\frac{\cos ^{2} \theta}{d_{1}} \underline{e}_{1} \otimes \underline{e}_{1}+\frac{\sin ^{2} \theta}{d_{3}} \underline{e}_{3} \otimes \underline{e}_{3}-\frac{\sin (2 \theta)}{2 \sqrt{d_{1} d_{3}}}\left(\underline{e}_{1} \otimes \underline{e}_{3}+\underline{e}_{3} \otimes \underline{e}_{1}\right) \tag{74}
\end{equation*}
$$

The eigenvector of (74) associated to the eigenvalue 0 is also the normal of the transformed crack and is given by

$$
\begin{equation*}
\underline{\tilde{n}}=\tilde{\gamma}\left(\sqrt{d_{1}} \sin \theta \underline{e}_{1}+\sqrt{d_{3}} \cos \theta \underline{e}_{3}\right) \quad \text { with } \quad \tilde{\gamma}=\frac{1}{\sqrt{d_{3} \cos ^{2} \theta+d_{1} \sin ^{2} \theta}} \tag{75}
\end{equation*}
$$

where the definition of $\tilde{\gamma}$ is consistent with (49) since the relationship $\boldsymbol{\Phi} \cdot \underline{\tilde{n}}=\tilde{\gamma} \underline{n}$ is clearly satisfied. The two nonzero eigenvalues of (74) are $\frac{1}{d_{2}}=d_{1} d_{3}$ and $\frac{1}{\tilde{\gamma}^{2} d_{1} d_{3}}$ so that two cases can occur depending on the order between these eigenvalues. In both cases, the $\operatorname{axes} \underline{\tilde{\ell}}, \underline{\tilde{m}}$ as well as the aspect ratio $\tilde{\eta}$ of the transformed crack are given herebelow. The crack opening displacement tensor $\overline{\tilde{\boldsymbol{B}}}(\overline{\tilde{\eta}})$ of the transformed elliptical crack in the isotropic matrix of Young modulus $E$ and Poisson ratio $v$ is fully determined in Appendix $C$ and writes as in (55). The $\boldsymbol{B}$ tensor of the initial problem is eventually calculated from (56) and the non-zero components are detailed herebelow.

- if $\tilde{\gamma} \geq \frac{1}{d_{1} d_{3}}$

$$
\begin{align*}
\tilde{a}=\sqrt{d_{1} d_{3}} ; \tilde{b}= & \frac{1}{\tilde{\gamma} \sqrt{d_{1} d_{3}}} ; \tilde{\eta}=\frac{1}{\tilde{\gamma} d_{1} d_{3}} \quad ; \quad \underline{\tilde{\ell}}=\underline{e}_{2} \quad ; \quad \underline{\tilde{m}}=\tilde{\gamma}\left(\sqrt{d_{3}} \cos \theta \underline{e}_{1}-\sqrt{d_{1}} \sin \theta \underline{e}_{3}\right)  \tag{76}\\
\boldsymbol{B}= & \tilde{\gamma} \sqrt{d_{1} d_{3}}\left(\tilde{\gamma}^{2} \tilde{B}_{n n} \underline{n} \otimes \underline{n}+\tilde{B}_{\ell \ell} d_{1} d_{3} \underline{m} \otimes \underline{m}+\right. \\
& \left.\frac{1}{\tilde{\gamma}^{2} d_{1} d_{3}} \tilde{B}_{m m}\left[\underline{\ell}+\frac{\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right)}{2} \sin (2 \theta) \underline{n}\right] \otimes\left[\underline{\ell}+\frac{\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right)}{2} \sin (2 \theta) \underline{n}\right]\right) \tag{77}
\end{align*}
$$

of non-zero components in the crack frame

$$
\left\{\begin{align*}
B_{n n} & =\frac{\tilde{\gamma}^{3}}{\sqrt{d_{1} d_{3}}}\left(d_{1} d_{3} \tilde{B}_{n n}+\frac{\left(d_{3}-d_{1}\right)^{2}}{4} \sin ^{2}(2 \theta) \tilde{B}_{m m}\right)  \tag{78a}\\
B_{m m} & =\tilde{\gamma}\left(d_{1} d_{3}\right)^{3 / 2} \tilde{B}_{\ell \ell}  \tag{78b}\\
B_{\ell \ell} & =\frac{1}{\tilde{\gamma} \sqrt{d_{1} d_{3}}} \tilde{B}_{m m}  \tag{78c}\\
B_{n \ell}=B_{\ell n} & =\frac{\tilde{\gamma}\left(d_{3}-d_{1}\right)}{2 \sqrt{d_{1} d_{3}}} \sin (2 \theta) \tilde{B}_{m m} \tag{78d}
\end{align*}\right.
$$

and in the matrix frame

$$
\left\{\begin{align*}
B_{11} & =\tilde{\gamma} \sqrt{d_{1} d_{3}}\left(\tilde{\gamma}^{2} \tilde{B}_{n n} \sin ^{2} \theta+\frac{\tilde{B}_{m m}}{\tilde{\gamma}^{2} d_{1} d_{3}} \cos ^{2} \theta\left(1+\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right) \sin ^{2} \theta\right)^{2}\right)  \tag{79a}\\
B_{22} & =\tilde{\gamma}\left(d_{1} d_{3}\right)^{3 / 2} \tilde{B}_{\ell \ell} \\
B_{33} & =\tilde{\gamma} \sqrt{d_{1} d_{3}}\left(\tilde{\gamma}^{2} \tilde{B}_{n n} \cos ^{2} \theta+\frac{\tilde{B}_{m m}}{\tilde{\gamma}^{2} d_{1} d_{3}} \sin ^{2} \theta\left(1-\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right) \cos ^{2} \theta\right)^{2}\right) \\
B_{31}=B_{13} & =\frac{\tilde{\gamma} \sqrt{d_{1} d_{3}} \sin (2 \theta)}{2}\left(\tilde{\gamma}^{2} \tilde{B}_{n n}\right. \\
& \left.-\frac{\tilde{B}_{m m}}{\tilde{\gamma}^{2} d_{1} d_{3}}\left(1-\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right) \cos (2 \theta)-\frac{\tilde{\gamma}^{4}\left(d_{3}-d_{1}\right)^{2}}{4} \sin ^{2}(2 \theta)\right)\right)
\end{align*}\right.
$$

- if $\tilde{\gamma}<\frac{1}{d_{1} d_{3}}$

$$
\begin{align*}
& \tilde{a}=\frac{1}{\tilde{\gamma} \sqrt{d_{1} d_{3}}} ; \tilde{b}=\sqrt{d_{1} d_{3}} ; \tilde{\eta}=\tilde{\gamma} d_{1} d_{3} \quad ; \quad \underline{\tilde{\ell}}=\tilde{\gamma}\left(\sqrt{d_{3}} \cos \theta \underline{e}_{1}-\sqrt{d_{1}} \sin \theta \underline{e}_{3}\right) \quad ; \quad \tilde{\tilde{m}}=\underline{e}_{2}  \tag{80}\\
& \boldsymbol{B}= \frac{1}{\sqrt{d_{1} d_{3}}}\left(\tilde{\gamma}^{2} \tilde{B}_{n n} \underline{n} \otimes \underline{n}+\tilde{B}_{m m} d_{1} d_{3} \underline{m} \otimes \underline{m}+\right. \\
&\left.\frac{1}{\tilde{\gamma}^{2} d_{1} d_{3}} \tilde{B}_{\ell \ell}\left[\underline{\ell}+\frac{\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right)}{2} \sin (2 \theta) \underline{n}\right] \otimes\left[\underline{\ell}+\frac{\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right)}{2} \sin (2 \theta) \underline{n}\right]\right) \tag{81}
\end{align*}
$$

of non-zero components in the crack frame

$$
\left\{\begin{align*}
B_{n n} & =\frac{\tilde{\gamma}^{2}}{\left(d_{1} d_{3}\right)^{3 / 2}}\left(d_{1} d_{3} \tilde{B}_{n n}+\frac{\left(d_{3}-d_{1}\right)^{2}}{4} \sin ^{2}(2 \theta) \tilde{B}_{\ell \ell}\right)  \tag{82a}\\
B_{m m} & =\sqrt{d_{1} d_{3} \tilde{B}_{m m}}  \tag{82b}\\
B_{\ell \ell} & =\frac{1}{\tilde{\gamma}^{2}\left(d_{1} d_{3}\right)^{3 / 2}} \tilde{B}_{\ell \ell}  \tag{82c}\\
B_{n \ell}=B_{\ell n} & =\frac{d_{3}-d_{1}}{2\left(d_{1} d_{3}\right)^{3 / 2}} \sin (2 \theta) \tilde{B}_{\ell \ell} \tag{82d}
\end{align*}\right.
$$

and in the matrix frame

$$
\left\{\begin{align*}
B_{11} & =\frac{1}{\sqrt{d_{1} d_{3}}}\left(\tilde{\gamma}^{2} \tilde{B}_{n n} \sin ^{2} \theta+\frac{\tilde{B}_{m m}}{\tilde{\gamma}^{2} d_{1} d_{3}} \cos ^{2} \theta\left(1+\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right) \sin ^{2} \theta\right)^{2}\right)  \tag{83a}\\
B_{22} & =\sqrt{d_{1} d_{3}} \tilde{B}_{m m} \\
B_{33} & =\frac{1}{\sqrt{d_{1} d_{3}}}\left(\tilde{\gamma}^{2} \tilde{B}_{n n} \cos ^{2} \theta+\frac{\tilde{B}_{m m}}{\tilde{\gamma}^{2} d_{1} d_{3}} \sin ^{2} \theta\left(1-\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right) \cos ^{2} \theta\right)^{2}\right) \\
B_{31}=B_{13} & =\frac{\sin (2 \theta)}{2 \sqrt{d_{1} d_{3}}}\left(\tilde{\gamma}^{2} \tilde{B}_{n n}\right. \\
& \left.-\frac{\tilde{B}_{m m}}{\tilde{\gamma}^{2} d_{1} d_{3}}\left(1-\tilde{\gamma}^{2}\left(d_{3}-d_{1}\right) \cos (2 \theta)-\frac{\tilde{\gamma}^{4}\left(d_{3}-d_{1}\right)^{2}}{4} \sin ^{2}(2 \theta)\right)\right)
\end{align*}\right.
$$

The rotation of the crack relatively to the matrix axes clearly implies that $\boldsymbol{B}$ is not diagonalized anymore neither in the crack frame nor in the matrix frame when $\theta$ is different from 0 or $\pi / 2$, inducing couplings between normal and shear modes. Some numerical examples illustrating non negligible couplings for different cases of matrix anisotropy
are presented in Figures 5. All the components of $\boldsymbol{B}$ in the crack frame, including the off-diagonal one, strongly depend on the crack orientation, which was rather expected from the anisotropy of the matrix. The components of $\boldsymbol{B}$ in the matrix frame also depend on the crack orientation but with a much narrower amplitude despite the choice of large anisotropy parameters (the ratio between extreme directional moduli is 16 here). In addition it is worth putting in evidence that the off-diagonal component in the matrix frame $B_{31}$ remains very small by comparison to the diagonal ones, which means that the principal axes of $\boldsymbol{B}$ are almost aligned with those of the matrix. The principal axes of $\boldsymbol{B}$ can be represented by orthonormal unit vectors $\underline{\ell}_{B}, \underline{m}$ and $\underline{n}_{B}$ of same expressions as their counterparts defining the crack in (73) with $\theta$ formally replaced by the angle $\theta_{B}$. The evolution of the latter angle with the crack rotation $\theta$, represented in Figure 6, shows that $\theta_{B}$ remains very close to 0 (always lower than about $\pi / 32$ with the chosen anisotropy parameters), which confirms that $\boldsymbol{B}$ is almost diagonalized in the matrix frame. All this explains why a constant $\boldsymbol{B}$ tensor, diagonal in the matrix frame, has already been considered as a rough approximation for any crack orientation ([26], [24]), although this result is not rigorously exact since relatively significant errors can occur (see $B_{33}$ in Figure 5b). The hereabove comments concern the present case of rotation of a circular crack around one of the matrix axes. The next section aims at proposing a more general case of crack orientation in order to check the extent of validity of these comments.


Figure 5: Components of the crack opening displacement tensor of a circular crack rotated with respect to a symmetry plane of an EO matrix ( $v=0.2$ )


Figure 6: Angle of rotation of the principal axes of $\boldsymbol{B}$ in function of the crack rotation

### 5.3. Elliptical crack arbitrarily oriented relatively to the matrix axes

This section presents an implementation of the calculation of the components of $\boldsymbol{B}$ tensor in the crack frame and in the matrix frame in general cases of crack orientation. An EO matrix with 3 different directional moduli is considered in which a circular or elliptical crack is embedded with evolving orientation such that the crack and matrix axes do not particularly share common directions. The strategy consists in choosing the principal axes of the matrix as canonical frame and setting the crack inclination $\theta$ and the angle $\psi$ (if the crack is not circular) in (19a)-(19c) different from 0 and $\pi / 2$ (see angle representation in Figure 1b) while allowing the angle $\phi$ to evolve between 0 and $\pi / 2$.

Figures 7a and 7b respectively related to a circular and elliptical crack embedded in an EO matrix of large anisotropy confirm the observations of section 5.2. Firstly the diagonal components of $\boldsymbol{B}$ in the matrix frame have a much lower amplitude of variation with the rotation angle $\phi$ than the components in the crack frame. Secondly the off-diagonal components of $\boldsymbol{B}$ in the matrix frame remain very small so that $\boldsymbol{B}$ can be roughly considered as diagonal in this frame whereas it is far from being the case in the crack axes, which is at the origin of normal-shear couplings. The approximation of $\boldsymbol{B}$ by a constant tensor (independent from the crack orientation) can be made but at the cost of relatively significant error since the variations with respect to $\phi$ of the diagonal components of $\boldsymbol{B}$ in the fixed crack frame are not fully negligible.

Figures 7 c and 7 d present the components of $\boldsymbol{B}$ in the case of small anisotropy ( $d_{i}$ are close to 1 ). The diagonal components in the matrix and crack frames show the same orders of magnitude and the same amplitudes of variation. Besides the off-diagonal components are all very small. It follows that approximating $\boldsymbol{B}$ by a constant here finally amounts to neglect the effect of anisotropy and consider the expression of $\boldsymbol{B}$ in an isotropic matrix in which $\boldsymbol{B}$ can be roughly taken as an homothety if $1-v / 2$ remains close to 1 and the crack is circular (see [53] and [7] and the expressions (C.21)). In the general case, approximating $\boldsymbol{B}$ by a constant tensor may be a too rough assumption.

## 6. Effective elasticity of a cracked EO medium

Once in possession of a practical way to calculate the crack opening displacement tensor for an arbitrarily oriented crack embedded in an EO matrix as derived in section 4.1 (see (52)) and subsequently the corresponding compliance tensor from (30), it is straightforward to apply the classical homogenization schemes allowing to estimate the effective elasticity of a representative volume element of cracked medium. The derivation of schemes is not detailed here (one can refer to [51] and [41]) but only the results are applied to the case of a set of elliptical open crack families, each of


Figure 7: Components of the crack opening displacement tensor of a crack arbitrarily rotated $(\theta=\pi / 3, \psi=\pi / 3)$ in an EO matrix $(v=0.2)$
them being defined by an orientation and an in-plane shape.
The non-interaction approximation (NIA), which coincides in the case of cracks with the Mori-Tanaka-Benveniste scheme [58], allows to write the macroscopic compliance of the crack medium as the sum of the matrix compliance $\mathbb{S}$ and compliance contributions of the crack families indexed by $i$

$$
\begin{equation*}
\mathbb{S}^{\mathrm{NIA}}=\mathbb{S}+\sum_{i} \frac{4}{3} \pi \epsilon_{i} \eta_{i} H_{i} \tag{84}
\end{equation*}
$$

where $\epsilon_{i}$ and $\eta_{i}$ are the crack density and the in-plane aspect ratio of the $i^{\text {th }}$ family. The density is defined as (see [2], [59], [4])

$$
\begin{equation*}
\epsilon_{i}=\mathcal{N}_{i} a_{i}^{3} \tag{85}
\end{equation*}
$$

where $\mathcal{N}_{i}$ denotes the number of cracks per volume unit and $a_{i}$ is the largest radius.
The Ponte-Castañeda Willis (PCW)) scheme [60] is also usually implemented in the case of a matrix containing heterogeneities such that the shapes of the latter and their spatial distribution are uncoupled. The most popular version of this scheme, which has been used for cracked media, consists in adopting one single ellipsoidal spatial distribution and several shapes and orientations of the heterogeneities. Another interesting scheme adapted to the case of a cracked material is the Maxwell one relying on an equivalence between the remote influence of the sum of heterogeneities located in an ellipsoidal domain and an effective particle of the same ellipsoidal shape and sought property [61]. Interestingly [62] recalls that Maxwell and PCW schemes coincide if the latter is defined with one single ellipsoidal spatial distribution which is precisely the counterpart of the shape of the effective particle in Maxwell scheme. In this case, the expression of the effective compliance writes

$$
\begin{equation*}
\mathbb{S}^{\mathrm{MAX}}=\mathbb{S}^{\mathrm{PCW}}=\mathbb{S}+\left(\left(\sum_{i} \frac{4}{3} \pi \epsilon_{i} \eta_{i} \mathbb{H}_{i}\right)^{-1}-\mathbb{Q}\right)^{-1} \tag{86}
\end{equation*}
$$

where $\mathbb{Q}$ is the second Hill tensor related to the ellipsoid describing the spatial distribution in the PCW scheme or the effective particle in the Maxwell scheme. This tensor corresponding to an ellipsoid embedded in an EO matrix can be practically calculated thanks to a transformation from an isotropic matrix as in (23) (see also [33] and [19]).

If the cracks are all circular $\left(\eta_{i}=1\right)$ and $\epsilon(\theta, \phi)$ denotes the density of cracks of unit normal oriented in the infinitesimal solid angle around $\underline{n}(\theta, \phi)$ given in (19c), the sum of crack contributions in (84) and (86) turns into a continuous expression

$$
\begin{equation*}
\sum_{i} \frac{4}{3} \pi \epsilon_{i} \eta_{i} H_{i} \rightarrow \int_{\theta=0}^{\pi} \int_{\phi=0}^{2 \pi} \frac{4}{3} \pi \epsilon(\theta, \phi) H(\theta, \phi) \frac{\sin \theta \mathrm{d} \phi \mathrm{~d} \theta}{4 \pi} \tag{87}
\end{equation*}
$$

where $H(\theta, \phi)$ is the crack compliance contribution tensor corresponding to the normal $\underline{n}(\theta, \phi)$ built from (30) and (52)). In absence of analytical integration, this continuous formulation can be estimated thanks to Lebedev quadrature [63] involving tabulated points $\left(\theta_{j}, \phi_{j}\right)$ and weights $w_{j}$ providing exact integration for a given maximal polynomial degree

$$
\begin{equation*}
\int_{\theta=0}^{\pi} \int_{\phi=0}^{2 \pi} \frac{4}{3} \pi \epsilon(\theta, \phi) \mathbb{H}(\theta, \phi) \frac{\sin \theta \mathrm{d} \phi \mathrm{~d} \theta}{4 \pi} \approx \frac{4}{3} \pi \sum_{j=1}^{N} w_{j} \epsilon\left(\theta_{j}, \phi_{j}\right) \mathbb{H}\left(\theta_{j}, \phi_{j}\right) \tag{88}
\end{equation*}
$$

In the following example a rule corresponding to $N=146$ points is chosen, which corresponds to a precision 19 in terms of polynomial degree. The case of an isotropically distributed orientation is considered so that the density is uniform and equal to the overall crack density $\epsilon(\theta, \phi)=\epsilon$. In addition, the spherical shape is adopted for the spatial distribution of the PCW scheme so that the crack density should theoretically be bounded by $\frac{3}{4 \pi}$ in consistency with the notion of security sphere put in evidence in [60]. Figure 8 represents, for different matrix anisotropy, the evolution with the crack density of the normalized distance of each homogenized stiffness $\mathbb{C}^{\text {hom }}$ (NIA or PCW) to the closest isotropic tensor $\mathbb{C}^{\text {iso }}$ defined as [64]

$$
\begin{equation*}
d\left(\mathbb{C}^{\text {hom }}, \mathrm{ISO}\right)=\frac{\left\|\mathbb{C}^{\text {hom }}-\mathbb{C}^{\text {iso }}\right\|}{\left\|\mathbb{C}^{\text {hom }}\right\|} \quad \text { with } \quad \mathbb{C}^{\text {iso }}=\frac{C_{i i j j j}^{\mathrm{hom}}}{3} \mathbb{J}+\frac{1}{5}\left(C_{i j i j}^{\mathrm{hom}}-\frac{C_{i i j j j}^{\mathrm{hom}}}{3}\right) \mathbb{K} \tag{89}
\end{equation*}
$$

where $\sqrt[l]{ }$ and $\mathbb{K}$ are the classical fourth-order projectors of isotropy. It is noticeable in Figure 8 that the presence of randomly oriented cracks in the EO matrix gradually attenuates the level of anisotropy as crack density increases. This result is the 3D counterpart of an observation already made in the 2D framework in [55].

## 7. Adaptation to a crack seen as a long cylinder of flat elliptical section or 2D crack

### 7.1. Cylindrical crack

This section revisits the main results of the paper in the case of a cylindrical crack, i.e. such that the domain defined by (24) is transformed in

$$
\begin{equation*}
\underline{x} \in \mathcal{I}_{A} \quad \Leftrightarrow \quad \underline{x} \cdot \underline{n}=0 \quad \text { and } \quad|\underline{x} \cdot \underline{m}| \leq b \tag{90}
\end{equation*}
$$



Figure 8: Normalized distance to isotropy of an EO matrix ( $v=0.2$ ) embedding isotropically distributed cracks


Figure 9: Cylindrical crack

This domain is obviously invariant by translation along $\underline{\ell}$ and asymptotically corresponds to the definition of the ellipsoid (17) with $\boldsymbol{A}$ given by (18) such that $c$ tends towards 0 and $a$ tends towards infinity. In addition to the two aspect ratios $\eta$ and $\omega$, a third one $\rho$ is conveniently introduced here

$$
\begin{equation*}
\eta=\frac{b}{a} \quad ; \quad \omega=\frac{c}{a} \quad ; \quad \rho=\frac{c}{b}=\frac{\omega}{\eta} \tag{91}
\end{equation*}
$$

Whereas these three aspect ratios are supposed to tend towards 0 in this geometrical representation, the most relevant one controlling the flattening of a cylinder of elliptical section towards the domain (90) is obviously $\rho$ since $b$ is the only remaining radius of finite length. As detailed in [50], $\rho$ plays here the same role as $\omega$ in a crack model of finite elliptical shape.

Although the cylindrical crack defined by (90) is geometrically obtained as a limit of an ellipsoid, it must be noticed that some important calculations of sections 3, 4 and Appendix C need to be handled with care when taking the limit $a \rightarrow \infty$ or $\eta \rightarrow 0$. In fact the right geometrical point of view preparing to the notion of 2D crack is that of a cylindrical crack as presented in Figure 9 in which the direction of the large axis $\underline{\ell}$ becomes the axis of the cylinder of half-length $L$ somehow replacing $a$ and tending towards infinity. With this model, the volume (26) and the surface (27) now become

$$
\begin{equation*}
V=2 L \pi b^{2} \rho \quad ; \quad S=4 L b \tag{92}
\end{equation*}
$$

Moreover, in order to build the counterpart of (28) and eventually (30) in the case of a cylindrical crack, the fraction $\frac{a \omega S}{V}$ must be changed in $\frac{b \rho S}{V}$, which boils down to $\frac{c S}{V}$ while implying that $\frac{3}{4}$ in (28) is changed in $\frac{2}{\pi}$. Indeed the
relevant compliance contribution tensor is now obtained from the limit $\lim _{\rho \rightarrow 0} \rho \mathbb{Q}^{-1}[50]$ and the relevant length for the normalization of the crack opening displacement is now $b$ instead of $a$. Since the relationship (29) remains valid, the counterpart of (30) is

$$
\begin{equation*}
\lim _{\rho \rightarrow 0} \rho \mathbb{Q}^{-1}=\frac{2}{\pi} \underline{n} \stackrel{s}{\otimes} \boldsymbol{B}^{\text {cyl }} \stackrel{s}{\otimes} \underline{n} \tag{93}
\end{equation*}
$$

where the notation $\boldsymbol{B}^{\text {cyl }}$ is used to avoid the confusion with its elliptical counterpart. In the present approach where the second-order crack opening displacement tensor is identified from the fourth-order compliance contribution tensor by (30) for an elliptical crack and (93) for a cylindrical one and keeping in mind that the aspect ratios are related by $\rho=\frac{\omega}{\eta}$ in (91), it follows that the consistency between both definitions entails

$$
\begin{equation*}
\frac{2}{\pi} \boldsymbol{B}^{\text {cyl }}=\frac{3}{4} \lim _{\eta \rightarrow 0} \frac{\boldsymbol{B}}{\eta} \quad \Rightarrow \quad \boldsymbol{B}^{\mathrm{cyl}}=\frac{3 \pi}{8} \lim _{\eta \rightarrow 0} \frac{\boldsymbol{B}}{\eta} \tag{94}
\end{equation*}
$$

The immediate consequence is the possibility to identify the $\boldsymbol{B}$ tensor of a cylindrical crack in an isotropic matrix from that of an elliptical crack (see Appendix C and more particulary (C.22)).

Beyond this identification of $\boldsymbol{B}^{\text {cyl }}$ from the elliptical shape and the determination of its expression when the matrix is isotropic, it is now necessary to examine the case of an EO matrix and revisit the reasoning leading to (52) in order to adapt it to the present specific shape, in other words the relationship between the sought $\boldsymbol{B}^{\text {cyl }}$ and that of the transformed isotropic problem. Coming back to the notion of asymptotic ellipsoidal shape defined by $\boldsymbol{A}$ in (18), it is clear that the direction of the cylinder axis is provided by taking the limit

$$
\begin{equation*}
\lim _{a \rightarrow \infty} \frac{\boldsymbol{A} \cdot \boldsymbol{A}}{a^{2}}=\underline{\ell} \otimes \underline{\ell} \tag{95}
\end{equation*}
$$

Indeed the fact that ${ }^{t} \boldsymbol{A} \cdot \boldsymbol{A}$ asymptotically behaves as a tensor of rank 1 is the consequence of the cylindrical shape of axis determined by the only eigenvector associated to a non-zero eigenvalue. Recalling that the transformed crack is obtained from $\tilde{\boldsymbol{A}}=\boldsymbol{A} \cdot \boldsymbol{\Phi}$, it follows that the latter crack is also of cylindrical type of axis determined by the eigenvector of the tensor

$$
\begin{equation*}
\lim _{a \rightarrow \infty} \frac{{ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}}{a^{2}}=(\boldsymbol{\Phi} \cdot \underline{\ell}) \otimes(\boldsymbol{\Phi} \cdot \underline{\ell}) \tag{96}
\end{equation*}
$$

In other words, $\underline{\mathscr{\ell}}$ is the unit vector colinear to $\boldsymbol{\Phi} \cdot \underline{\ell}$ such that

$$
\begin{equation*}
\boldsymbol{\Phi} \cdot \underline{\ell}=\tilde{\alpha} \underline{\tilde{\ell}} \quad \text { with } \quad \tilde{\alpha}=\|\boldsymbol{\Phi} \cdot \underline{\ell}\| \tag{97}
\end{equation*}
$$

A Taylor expansion of ${ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}$ to an upper order gives

$$
\begin{equation*}
{ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}=a^{2} \tilde{\alpha}^{2} \underline{\tilde{\varepsilon}} \otimes \underline{\tilde{\varepsilon}}+b^{2}(\boldsymbol{\Phi} \cdot \underline{m}) \otimes(\boldsymbol{\Phi} \cdot \underline{m})+O\left(\rho^{2}\right) \tag{98}
\end{equation*}
$$

The consequence is that the direction $\underline{\tilde{q}}$ corresponding to the transverse extension and the normal $\underline{\tilde{n}}$ of the transformed cylindrical crack are obtained by Gram-Schmidt process successively leading to

$$
\begin{equation*}
\boldsymbol{\Phi} \cdot \underline{m}=\tilde{\beta} \underline{\tilde{m}}+\tilde{v}_{\ell} \underline{\tilde{\ell}} \quad \text { with } \quad \tilde{v}_{\ell}=\underline{\tilde{e}} \cdot \boldsymbol{\Phi} \cdot \underline{m} \quad, \quad \tilde{\beta}=\left\|\boldsymbol{\Phi} \cdot \underline{m}-\tilde{v}_{\ell} \underline{\tilde{\ell}}\right\| \tag{99}
\end{equation*}
$$

and

$$
\begin{equation*}
\boldsymbol{\Phi} \cdot \underline{n}=\tilde{\gamma} \underline{\tilde{n}}+\tilde{w}_{m} \underline{\tilde{m}}+\tilde{w}_{\ell} \underline{\tilde{\varepsilon}} \quad \text { with } \quad \tilde{w}_{m}=\underline{\tilde{m}} \cdot \boldsymbol{\Phi} \cdot \underline{n}, \quad \tilde{w}_{\ell}=\underline{\tilde{\varepsilon}} \cdot \boldsymbol{\Phi} \cdot \underline{n}, \quad \tilde{\gamma}=\left\|\boldsymbol{\Phi} \cdot \underline{n}-\tilde{w}_{m} \underline{\tilde{m}}-\tilde{w}_{\ell} \underline{\tilde{f}}\right\| \tag{100}
\end{equation*}
$$

such that the counterpart of (43) is now

$$
\begin{equation*}
{ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}} \underset{\rho \rightarrow 0}{\sim} a^{2} \tilde{\alpha}^{2} \underline{\tilde{\varepsilon}} \otimes \underline{\tilde{\varepsilon}}+b^{2}\left(\tilde{\beta}^{2} \underline{\tilde{n}} \otimes \underline{\tilde{n}}+\rho^{2} \tilde{\gamma}^{2} \underline{\tilde{n}} \otimes \underline{\tilde{n}}+\rho^{2} \Delta\right) \quad \text { with } \quad \underline{\tilde{n}} \cdot \Delta \cdot \underline{\tilde{n}}=0 \tag{101}
\end{equation*}
$$

The equation of the transformed asymptotic ellipsoid (101) implies that the transformed aspect ratio of interest $\tilde{\rho}$ is now given by

$$
\begin{equation*}
\tilde{\rho}=\rho \frac{\tilde{\gamma}}{\tilde{\beta}} \tag{102}
\end{equation*}
$$

so that the counterpart of (46) becomes here

$$
\begin{equation*}
\lim _{\rho \rightarrow 0} \rho \mathbb{Q}^{-1}=\frac{\tilde{\beta}}{\tilde{\gamma}}(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}):\left[\lim _{\tilde{\rho} \rightarrow 0} \tilde{\rho} \tilde{\mathbb{Q}}^{-1}\right]:(\boldsymbol{\Phi} \stackrel{s}{\boxtimes} \boldsymbol{\Phi}) \tag{103}
\end{equation*}
$$

where the term into brackets of the right hand side denotes the fourth-order crack compliance contribution tensor related to the transformed isotropic problem to which can be associated a crack opening displacement tensor $\tilde{\boldsymbol{B}}^{\text {cyl }}$ thanks to (93) and practically calculated in (C.22). Observing in addition that the result (49) remains valid here since (97) and (99) contracted with $\underline{\tilde{n}}$ and the symmetry of $\boldsymbol{\Phi}$ prove that $\boldsymbol{\Phi} \cdot \underline{\tilde{n}}$ is colinear to $\underline{n}$, it follows that (51) and (52) are here adapted as

$$
\begin{equation*}
\lim _{\rho \rightarrow 0} \rho \mathbb{Q}^{-1}=\frac{2}{\pi} \tilde{\beta} \tilde{\gamma} \underline{n} \stackrel{s}{\otimes}\left(\boldsymbol{\Phi} \cdot \tilde{\boldsymbol{B}}^{\mathrm{cyl}} \cdot \boldsymbol{\Phi}\right)^{s} \stackrel{s}{n} \tag{104}
\end{equation*}
$$

and

$$
\begin{equation*}
\boldsymbol{B}^{\mathrm{cyl}}=\tilde{\beta} \tilde{\gamma} \boldsymbol{\Phi} \cdot \tilde{\boldsymbol{B}}^{\mathrm{cyl}} \cdot \boldsymbol{\Phi} \tag{105}
\end{equation*}
$$

Analogously to (53), given that $\tilde{\boldsymbol{A}}=\boldsymbol{A} \cdot \boldsymbol{\Phi}$ and $\operatorname{det} \boldsymbol{\Phi}=1$ the determinant of (101) yields

$$
\begin{equation*}
\operatorname{det}\left({ }^{t} \boldsymbol{A} \cdot \boldsymbol{A}\right)=a^{2} b^{2} \rho^{2} \quad \text { and } \quad \operatorname{det}\left({ }^{t} \tilde{\boldsymbol{A}} \cdot \tilde{\boldsymbol{A}}\right)=a^{2} b^{2} \rho^{2} \tilde{\alpha}^{2} \tilde{\beta}^{2} \tilde{\gamma}^{2} \quad \Rightarrow \quad \tilde{\alpha} \tilde{\beta} \tilde{\gamma}=1 \tag{106}
\end{equation*}
$$

which allows to rewrite (105) as

$$
\begin{equation*}
\boldsymbol{B}^{\mathrm{cyl}}=\frac{1}{\tilde{\alpha}} \boldsymbol{\Phi} \cdot \tilde{\boldsymbol{B}}^{\mathrm{cyl}} \cdot \boldsymbol{\Phi} \tag{107}
\end{equation*}
$$

## 7.2. $2 D$ crack

The notion of 2 D crack has been tackled in the literature either in plane strain or plain stress and some strategies of resolution of plane elasticity have been implemented ([7], [55], [56], [25]). Here the idea is to retrieve the opening displacement tensor related to a 2D crack as the limit of the result of a cylindrical crack in a 3D medium and check the validity by comparison with published results. The invariance along $\underline{\ell}$ of the cylindrical crack is geometrically consistent with the notion of 2D crack in the framework of plane strain but the hypothesis of plane mechanics also relies on the fact that the 2D stiffness of the medium is the restriction of a 3 D stiffness such that the considered plane is a symmetry plane. In other words, here the 3D EO stiffness is such that the axis of the cylindrical crack is one of the eigenvectors $\underline{e}_{i}^{D}$ of $\boldsymbol{D}(5)$. Without loss of generality, it is then possible to set the vectors $\underline{e}_{i}$ of the canonical frame as the eigenvectors of $\boldsymbol{D}$ and to choose the axis of the cylindrical crack as $\underline{e}_{3}$ so that the vectors $\underline{m}$ and $\underline{n}$ belong to the plane spanned by $\left\{\underline{e}_{1}, \underline{e}_{2}\right\}$ which is stable by $\boldsymbol{D}$ and $\boldsymbol{\Phi}$. The following developments rely on the solution of the infinite cylindrical crack so they must be considered in the framework of plane strain. However the results can be transformed into plane stress solution if $E /\left(1-v^{2}\right)$ is changed in $E$ (formula for isotropy also valid for EO materials defined by a compliance such as (4)).

The orientation of the crack in the EO medium such that $\underline{\ell}=\underline{e}_{3}$ and the definition of $\boldsymbol{\Phi}$ warrant from (97) that

$$
\begin{equation*}
\tilde{\alpha}=\frac{1}{\sqrt{d_{3}}}=\sqrt{d 1 d 2} \quad \text { and } \quad \underline{\tilde{\ell}}=\underline{\ell}=\underline{e}_{3} \tag{108}
\end{equation*}
$$

Besides the 2D crack opening displacement tensors are obtained by restriction of their counterparts for cylindrical cracks on the plane spanned by $\left\{\underline{e}_{1}, \underline{e}_{2}\right\}$. This means that, whatever the orientations of $\underline{m}$ and $\underline{n}$, (C.22) can be rewritten in tensor form (result known from [53] and [7])

$$
\begin{equation*}
\tilde{\boldsymbol{B}}^{2 \mathrm{D}}=\frac{\pi\left(1-v^{2}\right)}{E} \mathbf{1}^{2 \mathrm{D}}=\frac{\pi\left(1-v^{2}\right)}{E}\left(\underline{e}_{1} \otimes \underline{e}_{1}+\underline{e}_{2} \otimes \underline{e}_{2}\right) \tag{109}
\end{equation*}
$$

It follows that the 2D restriction of (107) yields

$$
\begin{equation*}
\boldsymbol{B}^{2 \mathrm{D}}=\frac{1}{\sqrt{d 1 d 2}} \frac{\pi\left(1-v^{2}\right)}{E} \mathbf{1}^{2 \mathrm{D}} \cdot \boldsymbol{D}^{-1}=\frac{1}{\sqrt{d 1 d 2}} \frac{\pi\left(1-v^{2}\right)}{E}\left(\frac{1}{d_{1}} \underline{e}_{1} \otimes \underline{e}_{1}+\frac{1}{d_{2}} \underline{e}_{2} \otimes \underline{e}_{2}\right) \tag{110}
\end{equation*}
$$

or in plane stress

$$
\begin{equation*}
\boldsymbol{B}^{2 \mathrm{D}}=\frac{1}{\sqrt{d 1 d 2}} \frac{\pi}{E} \mathbf{1}^{2 \mathrm{D}} \cdot \boldsymbol{D}^{-1}=\frac{1}{\sqrt{d 1 d 2}} \frac{\pi}{E}\left(\frac{1}{d_{1}} \underline{e}_{1} \otimes \underline{e}_{1}+\frac{1}{d_{2}} \underline{e}_{2} \otimes \underline{e}_{2}\right) \tag{111}
\end{equation*}
$$

The immediate consequence of (110) or (111) is that the $\boldsymbol{B}$ tensor of a 2D crack embedded in an EO medium does not depend on the orientation of the crack, which is consistent with a conclusion proven in the more general case of plane stress orthotropy in [55]

$$
\begin{equation*}
\boldsymbol{B}^{2 \mathrm{D}, O}=C(1+D) \underline{e}_{1} \otimes \underline{e}_{1}+C(1-D) \underline{e}_{2} \otimes \underline{e}_{2} \tag{112}
\end{equation*}
$$

with

$$
\begin{equation*}
C=\frac{\pi}{4} \frac{\sqrt{E_{1}}+\sqrt{E_{2}}}{\sqrt{E_{1} E_{2}}} \sqrt{\frac{1}{G_{12}}-\frac{2 v_{12}}{E_{1}}+\frac{2}{\sqrt{E_{1} E_{2}}}} ; \quad D=\frac{\sqrt{E_{1}}-\sqrt{E_{2}}}{\sqrt{E_{1}}+\sqrt{E_{2}}} \tag{113}
\end{equation*}
$$

It is straightforward to show that (112) coincides with (111) by exploiting (11), (15) and (16).

## 8. Conclusion

We derived explicit expression for crack opening displacement tensor of an arbitrarily oriented elliptical crack in an elliptically orthotropic matrix. The approach is based on Saint-Venant's classical idea of linear transformation between boundary value problems for elliptically orthotropic and isotropic bodies. This new result opens the way to analytical evaluation of the overall properties of 3D anisotropic materials containing multiple microcracks using traditional homogenization techniques (Mori-Tanaka-Benveniste scheme, Maxwell scheme, differential scheme, etc.). The existing analytical solutions for anisotropic materials can be applied only to transversely-isotropic materials containing elliptical cracks parallel to the plane of isotropy. Using the concept of approximate elastic symmetry, the proposed approach can be used also for materials that can be approximated as elliptically orthotropic and containing arbitrarily oriented cracks.

## Acknowledgements

The authors are grateful to Prof. Mark Kachanov for his very helpful comments on this work.
The author JFB thanks Cerema and Université Gustave Eiffel for allowing the creation of the joint research team entitled "Équipe de Recherche Commune sur les Matériaux pour une Construction Durable (ERC MCD)", within which these research works were carried out.

## Appendices

## Appendix A. Conventions of tensor algebra

Even if an intrinsic formalism is privileged in the paper, it may be instructive when necessary in this section to refer to an index notation always related to a given orthonormal frame $\left(\underline{e}_{i}\right)_{i=1,2,3}$.

The first notion that is useful to precise is that of the double-dot product since two definitions can be introduced as explained in [65] (https://sbrisard.github.io/category/tensor-algebra.html). The one adopted here is such that if $\boldsymbol{a}$ and $\boldsymbol{b}$ are two second-order tensors and $\mathbb{\mathbb { T }}$ is a fourth-order tensor

$$
\begin{equation*}
\boldsymbol{a}: \boldsymbol{b}=a_{i j} b_{i j} \quad \text { and } \quad \mathbb{T}: \boldsymbol{a}=T_{i j k l} a_{k l} \underline{e}_{i} \otimes \underline{e}_{j} \tag{A.1}
\end{equation*}
$$

where the Einstein notation of repeated indices is used and $\otimes$ denotes the classical tensor product. This means that the double-dot product does not apply successively to the closest indices but somehow to the couple of the two last indices of the tensor to the left with the couple of the two first indices of the tensor to the right. It follows that the fourth-order transpose tensor ${ }^{t} \mathbb{T}$ is defined as

$$
\begin{equation*}
{ }^{t} \mathbb{T}: \boldsymbol{a}=\boldsymbol{a}: \mathbb{T} \quad \Leftrightarrow \quad\left({ }^{t} \mathbb{T}\right)_{i j k l}=(\mathbb{T})_{k l i j} \tag{A.2}
\end{equation*}
$$

The notation $\stackrel{s}{\otimes}$ indicates a tensor product followed by a symmetrization over the last index of the tensor to the left of the product and the first index of the tensor to the right. For instance, if $\underline{u}$ and $\underline{v}$ are first-order tensors (i.e. vectors)

$$
\begin{equation*}
\underline{u} \stackrel{s}{\otimes} \underline{v}=\frac{\underline{u} \otimes \underline{v}+\underline{v} \otimes \underline{u}}{2} \tag{A.3}
\end{equation*}
$$

This tensor product can of course be generalized to combinations involving higher order tensors as for instance

$$
\begin{equation*}
\underline{u} \stackrel{s}{\otimes} \boldsymbol{a} \stackrel{s}{\otimes} \underline{v}=\frac{u_{i} a_{j k} v_{l}+u_{i} a_{j l} v_{k}+u_{j} a_{i k} v_{l}+u_{j} a_{i l} v_{k}}{4} \underline{e}_{i} \otimes \underline{e}_{j} \otimes \underline{e}_{k} \otimes \underline{e}_{l} \tag{A.4}
\end{equation*}
$$

Another useful operator introduced in [65] is the modified tensor product denoted by $\boxtimes$. The fourth-order tensor $\boldsymbol{a} \boxtimes \boldsymbol{b}$ (where $\boldsymbol{a}$ and $\boldsymbol{b}$ are two second-order tensors) is defined by its operation over any second-order tensor $\boldsymbol{p}$ and by its components

$$
\begin{equation*}
(\boldsymbol{a} \boxtimes \boldsymbol{b}): \boldsymbol{p}=\boldsymbol{a} \cdot \boldsymbol{p} \cdot{ }^{t} \boldsymbol{b}=a_{i k} p_{k l} b_{j l} \underline{e}_{i} \otimes \underline{e}_{j} \quad \Leftrightarrow \quad(\boldsymbol{a} \boxtimes \boldsymbol{b})_{i j k l}=a_{i k} b_{j l} \tag{A.5}
\end{equation*}
$$

A symmetrized version of $\boxtimes$ denoted by $\stackrel{s}{\boxtimes}$ can also be introduced. It operates as

$$
\begin{equation*}
(\boldsymbol{a} \boxtimes \boldsymbol{s} \boldsymbol{b}): \boldsymbol{p}=(\boldsymbol{a} \boxtimes \boldsymbol{b}):\left(\frac{\boldsymbol{p}+{ }^{t} \boldsymbol{p}}{2}\right)=\boldsymbol{a} \cdot\left(\frac{\boldsymbol{p}+{ }^{t} \boldsymbol{p}}{2}\right) \cdot{ }^{t} \boldsymbol{b} \quad \Leftrightarrow \quad\left(\boldsymbol{a} \stackrel{ }{\boxtimes}^{\boxtimes} \boldsymbol{b}\right)_{i j k l}=\frac{a_{i k} b_{j l}+a_{i l} b_{j k}}{2} \tag{A.6}
\end{equation*}
$$

It follows from these definitions that the fourth-order identity, as an operator over second-order tensors, writes $\mathbb{1}=\mathbf{1} \boxtimes \mathbf{1}$ where $\mathbf{1}$ is the second-order identity. The fourth-order operator allowing to extract the symmetric part of a second-order tensor writes $\square=\mathbf{1} \stackrel{s}{\boxtimes} \mathbf{1}$. The latter tensor, which obviously complies with the conditions of minor symmetries, is classically used to play the role of fourth-order identity operating over symmetric second-order tensors.

## Appendix B. Kelvin-Mandel convention

The Kelvin-Mandel convention allows to write the matrix of a symmetric second-order tensor in a given orthonormal frame $\left(\underline{e}_{i}\right)_{i=1,2,3}$ under the form of a vector of $\mathbb{R}^{6}$

$$
\operatorname{Mat}_{\left(\underline{e}_{i}\right)}(\boldsymbol{\varepsilon})=\left(\begin{array}{ccc}
\varepsilon_{11} & \varepsilon_{12} & \varepsilon_{31}  \tag{B.1}\\
\varepsilon_{12} & \varepsilon_{22} & \varepsilon_{23} \\
\varepsilon_{31} & \varepsilon_{23} & \varepsilon_{33}
\end{array}\right) \mapsto\left(\begin{array}{c}
\varepsilon_{11} \\
\varepsilon_{22} \\
\varepsilon_{33} \\
\sqrt{2} \varepsilon_{23} \\
\sqrt{2} \varepsilon_{31} \\
\sqrt{2} \varepsilon_{12}
\end{array}\right)
$$

The vector (B.1) corresponds for example to a writing convention of components related to the frame $(\underline{\ell}, \underline{m}, \underline{n})$ if 1 corresponds to $\underline{\ell}, 2$ to $\underline{m}$ and 3 to $\underline{n}$. In fact the basis of symmetric second-order tensors to which the vector (B.1) is related, is ordered as

$$
\begin{equation*}
\mathcal{B}=(\underline{\ell} \otimes \underline{\ell}, \underline{m} \otimes \underline{m}, \underline{n} \otimes \underline{n}, \sqrt{2} \underline{m} \stackrel{s}{\otimes} \underline{n}, \sqrt{2} \underline{n} \stackrel{s}{\otimes} \underline{\ell}, \sqrt{2} \underline{\ell} \stackrel{s}{\otimes} \underline{m}) \tag{B.2}
\end{equation*}
$$

The tensors of the basis (B.2) form an orthonormal frame spanning the space of symmetric second-order tensors equipped with the double contraction ":" as scalar product. It follows that the double contraction between symmetric second-order tensors is no other than the classical scalar product of the corresponding vectors of $\mathbb{R}^{6}$ written according to the convention (B.1).

Moreover a fourth-order tensor with minor symetries ( $C_{i j k l}=C_{j i k l}=C_{i j k}$ ), which can be seen as a linear operator acting over symmetric second-order tensors by double contraction, writes in the same convention under the form of a $6 \times 6$ square matrix (the solid lines separate blocks affected by different factors whereas the dashed lines highlights a central block playing a major role in the sequel)

$$
\operatorname{Mat}(\mathbb{C}, \mathcal{B})=\left(\begin{array}{cc:c|cc:c}
C_{1111} & C_{1122} & C_{1133} & \sqrt{2} C_{1123} & \sqrt{2} C_{1131} & \sqrt{2} C_{1112}  \tag{B.3}\\
C_{2211} & C_{2222} & C_{2233} & \sqrt{2} C_{2223} & \sqrt{2} C_{2233} & \sqrt{2} C_{2212} \\
\hdashline C_{3311} & C_{3322} & C_{3333} & \sqrt{2} C_{3323} & \sqrt{2} C_{3331} & \sqrt{2} C_{3312} \\
\hline \sqrt{2} C_{2311} & \sqrt{2} C_{2322} & \sqrt{2} C_{2333} & 2 C_{2323} & 2 C_{2331} & 2 C_{2312} \\
\sqrt{2} C_{3111} & \sqrt{2} C_{3122} & \sqrt{2} C_{3133} & 2 C_{3123} & 2 C_{3131} & 2 C_{3112} \\
\hdashline \sqrt{2} C_{1211} & \sqrt{2} C_{1222} & \sqrt{2} C_{1233} & 2 C_{1223} & 2 C_{1231} & 2 C_{1212}
\end{array}\right)
$$

The result of $\mathbb{C}: \boldsymbol{\varepsilon}$ writes as a classical matrix-vector product of (B.3) by (B.1).
However another way of ordering the tensors of (B.2), which proves useful for the calculation of crack compliance, is based on a gathering of one set of three in-plane and another one of three out-of-plane tensors (the latter involving $\underline{n}$ and the former not)

$$
\begin{equation*}
\mathcal{B}^{*}=(\underbrace{\underline{\ell} \otimes \underline{\ell}, \underline{m} \otimes \underline{m}, \sqrt{2} \stackrel{s}{\otimes} \underline{m}}_{\text {in-plane }}, \quad \underbrace{\underline{n} \otimes \underline{n}, \sqrt{2} \underline{m} \stackrel{s}{\otimes} \underline{n}, \sqrt{2} \stackrel{s}{\otimes} \underline{\ell}}_{\text {out-of-plane }}) \tag{B.4}
\end{equation*}
$$

such that the matrix of $\mathbb{C}$ in $\mathcal{B}^{*}$ is now obtained by permutations of lines and columns of (B.3) to give

$$
\operatorname{Mat}\left(\mathbb{C}, \mathcal{B}^{*}\right)=\left(\begin{array}{ccc|ccc}
C_{1111} & C_{1122} & \sqrt{2} C_{1112} & C_{1133} & \sqrt{2} C_{1123} & \sqrt{2} C_{1131}  \tag{B.5}\\
C_{2211} & C_{2222} & \sqrt{2} C_{2212} & C_{2233} & \sqrt{2} C_{2223} & \sqrt{2} C_{2231} \\
\sqrt{2} C_{1211} & \sqrt{2} C_{1222} & 2 C_{1212} & \sqrt{2} C_{1233} & 2 C_{1223} & 2 C_{1231} \\
\hline C_{3311} & C_{3322} & \sqrt{2} C_{3312} & C_{3333} & \sqrt{2} C_{3323} & \sqrt{2} C_{3331} \\
\sqrt{2} C_{2311} & \sqrt{2} C_{2322} & 2 C_{2312} & \sqrt{2} C_{2333} & 2 C_{2323} & 2 C_{2331} \\
\sqrt{2} C_{3111} & \sqrt{2} C_{3122} & 2 C_{3112} & \sqrt{2} C_{3133} & 2 C_{3123} & 2 C_{3131}
\end{array}\right)
$$

One may notice that the bottom right $3 \times 3$ block of (B.5) exactly corresponds to the block surrounded by dashed lines in (B.3).

## Appendix C. Crack opening displacement tensor in an isotropic matrix

The objective of this section is to calculate in the present framework the limit (34) and the associated crack opening displacement tensor satisfying (30) in the case of an elliptical crack of shape factor $\eta \leq 1$ (circular when $\eta \rightarrow 1$ ) and an isotropic matrix stiffness

$$
\begin{equation*}
\mathbb{C}=\lambda \mathbf{1} \otimes \mathbf{1}+2 \mu \mathbf{1} \stackrel{s}{\boxtimes} \mathbf{1}=3 \lambda \rrbracket+2 \mu \rrbracket \quad \text { with } \quad J=\frac{1}{3} \mathbf{1} \otimes \mathbf{1} \quad \text { and } \quad \mathbb{\square}=\mathbf{1} \stackrel{s}{\boxtimes} \mathbf{1} \tag{C.1}
\end{equation*}
$$

For such a reference medium, the first Hill tensor can be decomposed under a convenient form separating its mechanical and geometrical arguments ([66], [19])

$$
\begin{equation*}
\mathbb{P}=\frac{1}{\lambda+2 \mu} \mathbb{U}+\frac{1}{\mu}(\mathbb{V}-\mathbb{U}) \tag{C.2}
\end{equation*}
$$

where the tensors $\mathbb{U}$ and $\mathbb{V}$, depending only on the ellipsoidal tensor $\boldsymbol{A}$ of (20), are given by

$$
\begin{equation*}
\mathbb{U}=\frac{\operatorname{det} \boldsymbol{A}}{4 \pi} \int_{\| \| \underline{\xi} \|=1} \frac{\underline{\xi} \otimes \underline{\xi} \otimes \underline{\xi} \otimes \underline{\xi}}{\|A \cdot \underline{\xi}\|^{3}} \mathrm{~d} S_{\xi}=\frac{1}{4 \pi} \int_{\|\underline{\xi}\|=1} \frac{\left(A^{-1} \cdot \underline{\zeta}\right) \otimes\left(A^{-1} \cdot \underline{\zeta}\right) \otimes\left(A^{-1} \cdot \underline{\zeta}\right) \otimes\left(A^{-1} \cdot \underline{\zeta}\right)}{\left\|A^{-1} \cdot \underline{\zeta}\right\|^{4}} \mathrm{~d} S_{\zeta} \tag{C.3}
\end{equation*}
$$

and

$$
\begin{equation*}
V=\frac{\operatorname{det} \boldsymbol{A}}{4 \pi} \int_{\|\underline{\xi}\|=1} \frac{\underline{\xi}^{\otimes} \stackrel{s}{\otimes} \stackrel{s}{\otimes} \underline{\xi}}{\|\boldsymbol{A} \cdot \underline{\xi}\|^{3}} \mathrm{~d} S_{\xi}=\frac{1}{4 \pi} \int_{\|\underline{\xi}\|=1} \frac{\left(\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right) \stackrel{s}{\otimes} \mathbf{1} \stackrel{s}{\otimes}\left(\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right)}{\left\|\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right\|^{2}} \mathrm{~d} S_{\zeta} \tag{C.4}
\end{equation*}
$$

The complete determination for an arbitrary ellipsoid is provided in [66] or [19]. Nevertheless the strategy here consists in searching the Taylor expansion of these tensors with respect to the aspect ratio $\omega$ in the vicinity of 0 and more particularly their first order $\mathbb{U}_{1}$ and $\mathbb{V}_{1}$ in order to identify $\mathbb{P}_{1}$ in (31) and finally $\mathbb{Q}_{1}$ in (32) so as to calculate the limit (34)

$$
\begin{equation*}
\mathbb{U}=\mathbb{U}_{0}+\omega \mathbb{U}_{1}+O\left(\omega^{2}\right) \text { with } \mathbb{U}_{0}=\underline{n} \otimes \underline{n} \otimes \underline{n} \otimes \underline{n} \quad \text { and } \quad \mathbb{V}=\mathbb{V}_{0}+\omega \mathbb{V}_{1}+O\left(\omega^{2}\right) \text { with } \mathbb{V}_{0}=\underline{n} \stackrel{s}{\otimes} \stackrel{1}{\otimes}^{s} \underline{n} \tag{C.5}
\end{equation*}
$$

Even if it is not relevant for the calculation of the limit (34) and before focusing on the terms $\mathbb{U}_{1}$ and $\mathbb{V}_{1}$, it is worth remarking the consistency between the terms of order 0 in (C.5) introduced in (C.2) and $\mathbb{P}_{0}$ defined in (31) since the latter writes

$$
\begin{equation*}
\mathbb{P}_{0}=\underline{n} \stackrel{s}{\otimes}(\underline{n} \cdot \mathbb{C} \cdot \underline{n})^{-1} \stackrel{s}{\otimes} \underline{n}=\underline{n} \stackrel{s}{\otimes}((\lambda+2 \mu) \underline{n} \otimes \underline{n}+\mu(1-\underline{n} \otimes \underline{n}))^{-1} \stackrel{s}{\otimes} \underline{n}=\frac{1}{\lambda+2 \mu} U_{0}+\frac{1}{\mu}\left(\mathbb{V}_{0}-U_{0}\right) \tag{C.6}
\end{equation*}
$$

In addition, it is worth noting for further simplification in the calculation of $\mathbb{Q}_{1}$ that

$$
\begin{equation*}
U: \mathbf{1}=\mathbb{V}: \mathbf{1}=\frac{\operatorname{det} \boldsymbol{A}}{4 \pi} \int_{\|\underline{\xi}\|=1} \frac{\underline{\xi} \otimes \underline{\xi}}{\|\boldsymbol{A} \cdot \underline{\xi}\|^{3}} \mathrm{~d} S_{\xi}=\frac{1}{4 \pi} \int_{\|\underline{\xi}\|=1} \frac{\left(\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right) \otimes\left(\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right)}{\left\|\boldsymbol{A}^{-1} \cdot \underline{\zeta}\right\|^{2}} \mathrm{~d} S_{\zeta} \tag{C.7}
\end{equation*}
$$

and

$$
\begin{equation*}
\mathbf{1}: \mathbb{U}: \mathbf{1}=\mathbf{1}: \mathbb{V}: \mathbf{1}=1 \tag{C.8}
\end{equation*}
$$

which implies the following useful identities

$$
\begin{equation*}
\mathbb{U}: \mathbb{J}=\mathbb{V}: \mathbb{J} \Rightarrow(\mathbb{V}-\mathbb{U}): \mathbb{J}=\left(\mathbb{V}_{1}-\mathbb{U}_{1}\right): \mathbb{J}=\mathbb{0} \tag{C.9}
\end{equation*}
$$

and

$$
\begin{equation*}
\mathbb{J}: \mathbb{U}: \mathbb{J}=\mathbb{J}: \mathbb{V}: \mathbb{J}=\frac{1}{3} \mathbb{J} \Rightarrow \mathbb{J}: \mathbb{U}_{1}: \mathbb{J}=\mathbb{J}: \mathbb{V}_{1}: \mathbb{J}=\mathbb{0} \tag{C.10}
\end{equation*}
$$

It follows from (32), (C.2), (C.5) and (C.1) that $\mathbb{Q}_{1}$ writes

$$
\begin{equation*}
\mathbb{Q}_{1}=-\mathbb{C}: \mathbb{P}_{1}: \mathbb{C}=-\frac{4 \mu^{2}}{\lambda+2 \mu} \mathbb{U}_{1}-4 \mu\left(\mathbb{V}_{1}-\mathbb{U}_{1}\right)-\frac{6 \lambda \mu}{\lambda+2 \mu}\left(\mathbb{J}: \mathbb{U}_{1}+\mathbb{U}_{1}: \mathbb{J}\right) \tag{C.11}
\end{equation*}
$$

which rewrites in terms of Young modulus $E$ and Poisson ratio $v$

$$
\begin{equation*}
\mathbb{Q}_{1}=\frac{E}{1-v^{2}}\left(\mathbb{U}_{1}-2(1-v) \mathbb{V}_{1}-3 v\left(\mathbb{J}: \mathbb{U}_{1}+\mathbb{U}_{1}: J\right)\right) \tag{C.12}
\end{equation*}
$$

The determination of $\mathbb{Q}_{1}$ is achieved from the knowledge of $\mathbb{U}_{1}, \mathbb{V}_{1}$ and $\mathbb{J}: \mathbb{U}_{1}+\mathbb{U}_{1}: \mathbb{J}$ which can be obtained by expanding the expressions of $\mathbb{U}$ and $\mathbb{V}$ defined in [66] or [19] leading to the following matrices in the basis $\mathcal{B}$ (convention (B.3))

$$
\begin{align*}
& \operatorname{Mat}\left(\mathbb{U}_{1}, \mathcal{B}\right)=\left(\begin{array}{cc:ccc:c}
\frac{\eta \mathcal{L}}{2} & \frac{\eta \mathcal{M}}{2} & \frac{\eta \mathcal{H}}{2} & 0 & 0 & 0 \\
\frac{\eta \mathcal{M}}{2} & \frac{\mathcal{L}}{2 \eta} & \frac{\mathcal{G}}{2 \eta} & 0 & 0 & 0 \\
\hdashline \frac{\eta \mathcal{H}}{2} & \frac{\mathcal{G}}{2 \eta} & -\frac{3 \mathcal{E}}{2 \eta} & 0 & 0 & 0 \\
0 & 0 & 0 & \frac{\mathcal{G}}{\eta} & 0 & 0 \\
0 & 0 & 0 & 0 & \eta \mathcal{H} & 0 \\
\hdashline 0 & 0 & 0 & 0 & 0 & \eta \mathcal{M}
\end{array}\right)  \tag{C.13}\\
& \operatorname{Mat}\left(\mathbb{V}_{1}, \mathcal{B}\right)=\left(\begin{array}{cc:ccc:c}
\eta \mathcal{H} & 0 & 0 & 0 & 0 & 0 \\
0 & \frac{\mathcal{G}}{2 \eta} & 0 & 0 & 0 & 0 \\
\hdashline 0 & 0 & -\frac{\varepsilon}{\eta} & 0 & 0 & 0 \\
0 & 0 & 0 & -\frac{\eta \mathcal{H}}{2} & 0 & 0 \\
0 & 0 & 0 & 0 & -\frac{\mathcal{G}}{2 \eta} & 0 \\
\hdashline 0 & 0 & 0 & 0 & 0 & \frac{\mathcal{E}}{2 \eta}
\end{array}\right)  \tag{C.14}\\
& \operatorname{Mat}\left(\mathbb{J}: \mathbb{U}_{1}+\mathbb{U}_{1}: J, \mathcal{B}\right)=\left(\begin{array}{cc:ccc:c}
\frac{2 \eta \mathcal{H}}{3} & \frac{\mathcal{E}}{3 \eta} & -\frac{\mathcal{G}}{3 \eta} & 0 & 0 & 0 \\
\frac{\mathcal{E}}{3 \eta} & \frac{2 \mathcal{G}}{3 \eta} & -\frac{\eta \mathcal{H}}{3} & 0 & 0 & 0 \\
\hdashline-\frac{\mathcal{G}}{3 \eta} & -\frac{\eta \mathcal{H}}{3} & -\frac{2 \mathcal{E}}{3 \eta} & 0 & 0 & 0 \\
0 & 0 & 0 & 0 & 0 & 0 \\
0 & 0 & 0 & 0 & 0 & 0 \\
\hdashline 0 & 0 & 0 & 0 & 0 & 0
\end{array}\right) \tag{C.15}
\end{align*}
$$

where $\mathcal{K}=\mathcal{K}\left(\sqrt{1-\eta^{2}}\right)$ and $\mathcal{E}=\mathcal{E}\left(\sqrt{1-\eta^{2}}\right)$ are the complete elliptic integrals of respectively the first and second kind (see [57]) and

$$
\begin{equation*}
\mathcal{G}=\frac{\mathcal{E}-\eta^{2} \mathcal{K}}{1-\eta^{2}} ; \quad \mathcal{H}=\frac{\mathcal{K}-\mathcal{E}}{1-\eta^{2}} ; \quad \mathcal{L}=\frac{\mathcal{G}-\eta^{2} \mathcal{H}}{1-\eta^{2}}=\frac{\left(1+\eta^{2}\right) \mathcal{E}-2 \eta^{2} \mathcal{K}}{\left(1-\eta^{2}\right)^{2}} ; \quad \mathcal{M}=\frac{\mathcal{H}-\mathcal{G}}{1-\eta^{2}}=\frac{\left(1+\eta^{2}\right) \mathcal{K}-2 \mathcal{E}}{\left(1-\eta^{2}\right)^{2}} \tag{C.16}
\end{equation*}
$$

with the limits in the circular case

$$
\begin{equation*}
\lim _{\eta \rightarrow 1} \mathcal{K}=\lim _{\eta \rightarrow 1} \mathcal{E}=\frac{\pi}{2} \quad ; \quad \lim _{\eta \rightarrow 1} \mathcal{G}=\lim _{\eta \rightarrow 1} \mathcal{H}=\frac{\pi}{4} \quad ; \quad \lim _{\eta \rightarrow 1} \mathcal{L}=\frac{3 \pi}{16} \quad ; \quad \lim _{\eta \rightarrow 1} \mathcal{M}=\frac{\pi}{16} \tag{C.17}
\end{equation*}
$$

The relevant $3 \times 3$ matrix block of $\mathbb{Q}_{1}$ (i.e. $Y_{22}$ in (33)) is obtained by exploiting the block surrounded by dashed
lines of (C.13), (C.14) and (C.15) in (C.12) providing

$$
Y_{22}=\frac{E}{1-v^{2}}\left(\begin{array}{ccc}
\frac{\mathcal{E}}{2 \eta} & 0 & 0  \tag{C.18}\\
0 & \frac{\mathcal{G}}{\eta}+(1-v) \eta \mathcal{H} & 0 \\
0 & 0 & \eta \mathcal{H}+(1-v) \frac{\mathcal{G}}{\eta}
\end{array}\right)
$$

Thanks to the result (34) and recalling the tensors concerned by the block $Y_{22}$, the crack compliance tensor $\mathbb{H}$ finally writes

$$
\begin{align*}
\mathbb{H}=\lim _{\omega \rightarrow 0} \omega \mathbb{Q}^{-1}= & \frac{1-v^{2}}{E}\left(\frac{2 \eta}{E} \underline{n} \otimes \underline{n} \otimes \underline{n} \otimes \underline{n}+\frac{\eta}{\mathcal{G}+(1-v) \eta^{2} \mathcal{H}}(\sqrt{2} \underline{\underline{\otimes}} \stackrel{s}{\otimes}) \otimes(\sqrt{2} \underline{m} \stackrel{s}{\otimes} \underline{n})\right. \\
& \left.+\frac{\eta}{\eta^{2} \mathcal{H}+(1-v) \mathcal{G}}(\sqrt{2} \underline{n} \stackrel{s}{\otimes} \underline{\ell}) \otimes(\sqrt{2} \underline{s} \stackrel{s}{\otimes} \underline{\ell})\right) \\
= & \frac{2 \eta\left(1-v^{2}\right)}{E} \underline{n} \stackrel{s}{\otimes}\left(\frac{\underline{n} \otimes \underline{n}}{\mathcal{E}}+\frac{\underline{m} \otimes \underline{m}}{\mathcal{G}+(1-v) \eta^{2} \mathcal{H}}+\frac{\underline{\ell} \otimes \underline{\ell}}{\eta^{2} \mathcal{H}+(1-v) \mathcal{G}}\right) \stackrel{s}{\otimes}^{s} \underline{n} \tag{C.19}
\end{align*}
$$

From (C.19) the identification of $\boldsymbol{B}$ of the type (35) satisfying (30) is straightforward and allows to retrieve formulas provided in [53], [54] and [41]

$$
\left\{\begin{array}{l}
B_{n n}=\frac{8 \eta\left(1-v^{2}\right)}{3 E} \frac{1}{\mathcal{E}}  \tag{C.20a}\\
B_{m m}=\frac{8 \eta\left(1-v^{2}\right)}{3 E} \frac{1}{\mathcal{G}+(1-v) \eta^{2} \mathcal{H}}=\frac{8 \eta\left(1-v^{2}\right)}{3 E} \frac{1-\eta^{2}}{\left(1-(1-v) \eta^{2}\right) \mathcal{E}-v \eta^{2} \mathcal{K}} \\
B_{\ell \ell}=\frac{8 \eta\left(1-v^{2}\right)}{3 E} \frac{1}{\eta^{2} \mathcal{H}+(1-v) \mathcal{G}}=\frac{8 \eta\left(1-v^{2}\right)}{3 E} \frac{1-\eta^{2}}{\left(1-v-\eta^{2}\right) \mathcal{E}+v \eta^{2} \mathcal{K}}
\end{array}\right.
$$

and the limits in the circular case using (C.17)

$$
\begin{equation*}
B_{n n}=\frac{16\left(1-v^{2}\right)}{3 \pi E} \quad ; \quad B_{m m}=B_{\ell \ell}=\frac{B_{n n}}{1-v / 2} \tag{C.21}
\end{equation*}
$$

The second-order crack opening displacement tensor associated to a cylindrical crack as defined in section 7 is given by taking the limit obtained in (94) i.e. $\frac{3 \pi}{8} \lim _{\eta \rightarrow 0} \frac{B^{\text {ell }}}{\eta}$, which gives here

$$
\begin{equation*}
B_{n n}^{\mathrm{cyl}}=B_{m m}^{\mathrm{cyl}}=\frac{\pi\left(1-v^{2}\right)}{E} \quad ; \quad B_{\ell \ell}^{\mathrm{cyl}}=\frac{\pi(1+v)}{E} \tag{C.22}
\end{equation*}
$$

In plane mechanics, the relevant components $B_{n n}^{\mathrm{cyl}}$ and $B_{m m}^{\mathrm{cyl}}$ correspond to the framework of plane strain since the geometry is considered as infinite in the direction of the axis of the crack. The case of plane stress can classically be retrieved by changing $E /\left(1-v^{2}\right)$ in $E$ so that these components become equal to $\pi / E$. Note that these components have already been expressed in [53] and [7]. In particular the fact that $B_{n n}^{\mathrm{cyl}}=B_{m m}^{\mathrm{cyl}}$, which is not generally the case in 3D for elliptical (C.20a)-(C.20b) or circular (C.17) cracks, is an important feature commented in [53] and [7] as the origin of the orthotropic symmetry of 2D cracked media.

## References

[1] R. A. Sack, Extension of Griffith's theory of rupture to three dimensions, Proc. Phys. Soc. 58 (6) (1946) 729-736 (nov 1946). doi:10. 1088/ 0959-5309/58/6/312.
URL https://iopscience.iop.org/article/10.1088/0959-5309/58/6/312
[2] J. R. Bristow, Microcracks, and the static and dynamic elastic constants of annealed and heavily cold-worked metals, Br. J. Appl. Phys. 11 (2) (1960) 81-85 (feb 1960). doi:10.1088/0508-3443/11/2/309.

URL https://iopscience.iop.org/article/10.1088/0508-3443/11/2/309
[3] R. J. O'Connell, B. Budiansky, Seismic velocities in dry and saturated cracked solids, J. Geophys. Res. 79 (35) (1974) 5412-5426 (dec 1974 ). doi:10.1029/JB079i035p05412.
URL http://doi.wiley.com/10.1029/JB079i035p05412
[4] B. Budiansky, R. J. O’Connell, Elastic moduli of a cracked solid, Int. J. Solids Struct. 12 (2) (1976) 81-97 (1976). doi:10.1016/ 0020-7683(76)90044-5.
URL https://linkinghub.elsevier.com/retrieve/pii/0020768376900445
[5] J. R. Rice, Continuum mechanics and thermodynamics of plasticity in relation to microscale deformation mechanisms, in: A. Argon (Ed.), Const. Equations Plast., MIT Press, Cambridge, 1975, pp. 23-79 (1975).
[6] M. Kachanov, I. Sevostianov, Rice's Internal Variables Formalism and Its Implications for the Elastic and Conductive Properties of Cracked Materials, and for the Attempts to Relate Strength to Stiffness, J. Appl. Mech. 79 (3) (may 2012). doi:10.1115/1.4005957.
URL https://asmedigitalcollection.asme.org/appliedmechanics/article/doi/10.1115/1.4005957/456009/ Rices-Internal-Variables-Formalism-and-Its
[7] M. Kachanov, Elastic Solids with Many Cracks and Related Problems, in: Adv. Appl. Mech., Vol. 30, 1993, pp. 259-445 (1993). doi: 10.1016/S0065-2156(08)70176-5.

URL https://linkinghub.elsevier.com/retrieve/pii/S0065215608701765
[8] J. Willis, The stress field around an elliptical crack in an anisotropic elastic medium, Int. J. Eng. Sci. 6 (5) (1968) 253-263 (jun 1968). doi:10.1016/0020-7225(68)90025-6.
URL https://linkinghub.elsevier.com/retrieve/pii/0020722568900256
[9] A. Hoenig, Elastic and Electric Moduli of Non-randomly Cracked Bodies, Harvard University, 1977 (1977).
[10] A. Hoenig, The behavior of a flat elliptical crack in an anisotropic elastic body, Int. J. Solids Struct. 14 (11) (1978) 925-934 (1978). doi: 10.1016/0020-7683(78)90068-9.

URL https://linkinghub.elsevier.com/retrieve/pii/0020768378900689
[11] J. R. Rice, A Path Independent Integral and the Approximate Analysis of Strain Concentration by Notches and Cracks, J. Appl. Mech. 35 (2) (1968) 379-386 (jun 1968). doi:10.1115/1.3601206.

URL https://asmedigitalcollection.asme.org/appliedmechanics/article/35/2/379/392117/ A-Path-Independent-Integral-and-the-Approximate
[12] B. Budiansky, J. R. Rice, Conservation Laws and Energy-Release Rates, J. Appl. Mech. 40 (1) (1973) 201-203 (mar 1973). doi:10.1115/1.3422926.
URL https://asmedigitalcollection.asme.org/appliedmechanics/article/40/1/201/387600/ Conservation-Laws-and-EnergyRelease-Rates
[13] H. Laubie, F.-J. Ulm, Irwin's conjecture: Crack shape adaptability in transversely isotropic solids, J. Mech. Phys. Solids 68 (1) (2014) 1-13 (aug 2014). doi:10.1016/j.jmps.2014.03.004.
URL http://dx.doi.org/10.1016/j.jmps.2014.03.004https://linkinghub.elsevier.com/retrieve/pii/ S0022509614000441
[14] V. Fabrikant, Applications of Potential Theory in Mechanics: Selection of new results, Kluwer Academic Publishers, The Netherlands, 1989 (1989).
[15] N. Laws, A short note on penny-shaped cracks in transversely isotropic materials, Mech. Mater. 4 (1985) 209-212 (1985).
[16] P. J. Withers, The determination of the elastic field of an ellipsoidal inclusion in a transversely isotropic medium, and its relevance to composite materials, Philos. Mag. A 59 (4) (1989) 759-781 (apr 1989). doi:10.1080/01418618908209819. URL http://www.tandfonline.com/doi/abs/10.1080/01418618908209819
[17] H. Y. Yu, S. C. Sanday, C. I. Chang, Elastic inclusions and inhomogeneities in transversely isotropic solids, Proc. R. Soc. London. Ser. A Math. Phys. Sci. 444 (1920) (1994) 239-252 (jan 1994). doi: 10.1098/rspa.1994.0014. URL https://royalsocietypublishing.org/doi/10.1098/rspa.1994.0014
[18] I. Sevostianov, N. Yilmaz, V. Kushch, V. Levin, Effective elastic properties of matrix composites with transversely-isotropic phases, Int. J. Solids Struct. 42 (2) (2005) 455-476 (jan 2005). doi:10.1016/j.ijsolstr.2004.06.047. URL https://linkinghub.elsevier.com/retrieve/pii/S0020768304003464
[19] J.-F. Barthélémy, Simplified approach to the derivation of the relationship between Hill polarization tensors of transformed problems and applications, Int. J. Eng. Sci. 154 (2020) 103326 (sep 2020). doi:10.1016/j.ijengsci. 2020.103326. URL https://linkinghub.elsevier.com/retrieve/pii/S0020722520301142
[20] M. L. Dunn, H. Wienecke, Inclusions and inhomogeneities in transversely isotropic piezoelectric solids, Int. J. Solids Struct. 34 (27) (1997) 3571-3582 (sep 1997). doi:10.1016/S0020-7683(96)00209-0.
URL https://linkinghub.elsevier.com/retrieve/pii/S0020768396002090
[21] V. M. Levin, T. Michelitsch, I. Sevostianov, Spheroidal inhomogeneity in a transversely isotropic piezoelectric medium, Arch. Appl. Mech. (Ingenieur Arch. 70 (10) (2000) 673-693 (dec 2000). doi:10.1007/s004190000115.
URL http://link.springer.com/10.1007/s004190000115
[22] Y. Mikata, Determination of piezoelectric Eshelby tensor in transversely isotropic piezoelectric solids, Int. J. Eng. Sci. 38 (6) (2000) 605-641 (2000). doi:10.1016/S0020-7225(99)00050-6.

URL http://linkinghub.elsevier.com/retrieve/pii/S0020722599000506
[23] S. Kanaun, V. Levin, Elliptical cracks arbitrarily oriented in 3D-anisotropic elastic media, Int. J. Eng. Sci. 47 (7-8) (2009) 777-792 (jul 2009). doi:10.1016/j.ijengsci.2008.12.014.
URL https://linkinghub.elsevier.com/retrieve/pii/S0020722508002292
[24] F. Guerrero, I. Sevostianov, A. Giraud, On a Possible Approximation of Changes in Elastic Properties of a Transversely Isotropic Material due to an Arbitrarily Oriented Crack, Int. J. Fract. 153 (2) (2008) 169-176 (oct 2008). doi:10.1007/s10704-009-9311-1.
URL http://link.springer.com/10.1007/s10704-009-9311-1
[25] I. Tsukrov, M. Kachanov, Effective moduli of an anisotropic material with elliptical holes of arbitrary orientational distribution, Int. J. Solids

Struct. 37 (41) (2000) 5919-5941 (oct 2000). doi:10.1016/S0020-7683(99)00244-9.
URL https://linkinghub.elsevier.com/retrieve/pii/S0020768399002449
[26] F. Guerrero, I. Sevostianov, A. Giraud, On an Arbitrarily Oriented Crack in a Transversely-isotropic Medium, Int. J. Fract. 148 (3) (2007) 273-279 (dec 2007). doi:10.1007/s10704-008-9191-9.
URL http://link.springer.com/10.1007/s10704-008-9191-9
[27] I. Sevostianov, M. Kachanov, On approximate symmetries of the elastic properties and elliptic orthotropy, Int. J. Eng. Sci. 46 (3) (2008) 211-223 (2008). doi:10.1016/j.ijengsci.2007.11.003.
[28] S. Seyedkavoosi, E. Vilchevskaya, I. Sevostianov, Randomly oriented cracks in a transversely isotropic material, Int. J. Solids Struct. 150 (2018) 222-229 (2018). doi:10.1016/j.ijsolstr.2018.06.013.

URL https://doi.org/10.1016/j.ijsolstr.2018.06.013
[29] A. Barré de Saint-Venant, Sur la distribution des élasticités autour de chaque point d'un solide ou d'un milieu de contexture quelconque, particulièrement lorsqu'il est amorphe sans être isotrope (Premier article), J. Math. Pures Appl. 8 (2) (1863) 257-295 (1863).
[30] A. Barré de Saint-Venant, Sur la distribution des élasticités autour de chaque point d'un solide ou d'un milieu de contexture quelconque, particulièrement lorsqu'il est amorphe sans être isotrope (Deuxième article), J. Math. Pures Appl. 8 (2) (1863) 353-430 (1863).
[31] A. Pouya, A. Zaoui, A transformation of elastic boundary value problems with application to anisotropic behavior, Int. J. Solids Struct. 43 (2006) 4937-4956 (2006). doi:10.1016/j.ijsolstr.2005.06.046.
[32] A. Pouya, Ellipsoidal anisotropy in linear elasticity: Approximation models and analytical solutions, Int. J. Solids Struct. 48 (14-15) (2011) 2245-2254 (2011). doi:10.1016/j.ijsolstr.2011.03.028.
URL http://dx.doi.org/10.1016/j.ijsolstr.2011.03.028
[33] I. Sevostianov, V. I. Kushch, Compliance contribution tensor of an arbitrarily oriented ellipsoidal inhomogeneity embedded in an orthotropic elastic material, Int. J. Eng. Sci. 149 (2020) 103222 (2020). doi:10.1016/j.ijengsci. 2020. 103222. URL https://doi.org/10.1016/j.ijengsci.2020.103222
[34] V. I. Kushch, I. Sevostianov, Ellipsoidal inhomogeneity in elliptically orthotropic elastic solid, Int. J. Solids Struct. 206 (2020) 282-291 (dec 2020). doi:10.1016/j.ijsolstr.2020.09.025.

URL https://linkinghub.elsevier.com/retrieve/pii/S0020768320303760
[35] J. D. Eshelby, The determination of the elastic field of an ellipsoidal inclusion, and related problems, Proc. R. Soc. London. Ser. A. Math. Phys. Sci. 241 (1226) (1957) 376-396 (aug 1957). doi:10.1098/rspa.1957. 0133.
URL https://royalsocietypublishing.org/doi/10.1098/rspa.1957.0133
[36] V. P. Kazantsev, About the depolarization tensor, Russ. Phys. J. 43 (10) (2000) 854-859 (2000). doi:10.1023/A : 1009441018629.
[37] V. Guihard, C. Patapy, J. Sanahuja, J.-P. Balayssac, F. Taillade, B. Steck, Effective medium theories in electromagnetism for the prediction of water content in cement pastes, Int. J. Eng. Sci. 150 (2020) 103273 (may 2020). doi:10.1016/j.ijengsci. 2020. 103273.
URL
https://doi.org/10.1016/j.ijengsci.2020.103273https://linkinghub.elsevier.com/retrieve/pii/ S0020722520300616
[38] A. P. Suvorov, G. J. Dvorak, Rate form of the Eshelby and Hill tensors, Int. J. Solids Struct. 39 (2002) 5659-5678 (2002). doi:10.1016/ S0020-7683(02)00369-4.
[39] W. J. Parnell, The Eshelby, Hill, Moment and Concentration Tensors for Ellipsoidal Inhomogeneities in the Newtonian Potential Problem and Linear Elastostatics, J. Elast. 125 (2) (2016) 231-294 (dec 2016). doi :10.1007/s10659-016-9573-6.
URL http://dx.doi.org/10.1007/s10659-016-9573-6http://link.springer.com/10.1007/s10659-016-9573-6
[40] R. Masson, New explicit expressions of the Hill polarization tensor for general anisotropic elastic solids, Int. J. Solids Struct. 45 (2008) 757-769 (2008).
[41] M. Kachanov, I. Sevostianov, Micromechanics of Materials, with Applications, Vol. 249 of Solid Mechanics and Its Applications, Springer International Publishing, Cham, 2018 (2018). doi:10.1007/978-3-319-76204-3. URL http://link.springer.com/10.1007/978-3-319-76204-3
[42] H. Ammari, Y. Capdeboscq, H. Kang, H. Lee, G. W. Milton, H. Zribi, Progress on the strong Eshelby's conjecture and extremal structures for the elastic moment tensor, J. Math. Pures Appl. 94 (1) (2010) 93-106 (jul 2010). doi:10.1016/j .matpur . 2010.01.003.
URL http://dx.doi.org/10.1016/j.matpur.2010.01.003https://linkinghub.elsevier.com/retrieve/pii/ S0021782410000115
[43] A. Pouya, Ellipsoidal Anisotropies in Linear Elasticity: Extension of Saint Venant's Work to Phenomenological Modeling of Materials, Int. J. Damage Mech. 16 (1) (2007) 95-126 (jan 2007). arXiv:1012.5148, doi:10.1177/1056789507065895.

URL http://arxiv.org/abs/1012.5148http://journals.sagepub.com/doi/10.1177/1056789507065895
[44] R. Hill, Elastic properties of reinforced solids: Some theoretical principles, J. Mech. Phys. Solids 11 (5) (1963) 357-372 (sep 1963). doi: 10.1016/0022-5096(63) 90036-X.

URL https://linkinghub.elsevier.com/retrieve/pii/002250966390036X
[45] L. Walpole, On bounds for the overall elastic moduli of inhomogeneous systems - I, J. Mech. Phys. Solids 14 (3) (1966) 151-162 (may 1966). doi:10.1016/0022-5096(66)90035-4.
URL https://linkinghub.elsevier.com/retrieve/pii/0022509666900354
[46] J. Willis, Bounds and self-consistent estimates for the overall properties of anisotropic composites, J. Mech. Phys. Solids 25 (3) (1977) 185-202 (1977).
[47] T. Mura, Micromechanics of Defects in Solids, Second Edition, Kluwer Academic, 1987 (1987). doi:10.1002/zamm. 19890690204.
[48] N. Laws, A note on interaction energies associated with cracks in anisotropic solids, Philos. Mag. 36 (2) (1977) 367-372 (1977).
[49] S. Nemat-Nasser, M. Hori, Micromechanics: Overall Properties of Heterogeneous Materials 2nd Edition (1999).
[50] J.-F. Barthélémy, Compliance and Hill polarization tensor of a crack in an anisotropic matrix, Int. J. Solids Struct. 46 (22-23) (2009) 40644072 (2009). doi:10.1016/j.ijsolstr.2009.08.003.
[51] L. Dormieux, D. Kondo, Micromechanics of Fracture and Damage, John Wiley \& Sons, Inc., Hoboken, NJ, USA, 2016 (may 2016). doi : 10.1002/9781119292166.

URL http://doi.wiley.com/10.1002/9781119292166
[52] I. Sevostianov, M. Kachanov, T. Zohdi, On computation of the compliance and stiffness contribution tensors of non ellipsoidal inhomogeneities, Int. J. Solids Struct. 45 (16) (2008) 4375-4383 (aug 2008). doi:10.1016/j .ijsolstr . 2008. 03. 020 .
URL https://linkinghub.elsevier.com/retrieve/pii/S002076830800125X
[53] M. Kachanov, Effective Elastic Properties of Cracked Solids: Critical Review of Some Basic Concepts, Appl. Mech. Rev. 45 (8) (1992) 304-335 (aug 1992). doi:10.1115/1.3119761.
URL https://asmedigitalcollection.asme.org/appliedmechanicsreviews/article/45/8/304/421514/ Effective-Elastic-Properties-of-Cracked-Solids
[54] I. Sevostianov, M. Kachanov, On elastic compliances of irregularly shaped cracks, Int. J. Fract. 114 (2002) 245-257 (may 2002). doi: 10.1023/A: 1015534127172.
[55] C. Mauge, M. Kachanov, Effective elastic properties of an anisotropic material with arbitrarily oriented interacting cracks, J. Mech. Phys. Solids 42 (4) (1994) 561-584 (1994). doi:10.1016/0022-5096(94) 90052-3.
[56] C. Mauge, M. Kachanov, Anisotropic material with interacting arbitrarily oriented cracks. Stress intensity factors and crack-microcrack interactions, Int. J. Fract. 65 (2) (1994) 115-139 (1994). doi:10.1007/BF00032283.
[57] M. Abramowitz, I. A. Stegun, Handbook of Mathematical Functions, National Bureau of Standards - Applied Mathematics Series - 55, Washington D.C., 1972 (1972).
[58] T. Mori, K. Tanaka, Average stress in the matrix and average elastic energy of materials with misfitting inclusions, Acta Met. 21 (1973) 571-574 (1973).
[59] J. B. Walsh, The effect of cracks on the compressibility of rock, J. Geophys. Res. 70 (2) (1965) 381-389 (jan 1965). doi:10.1029/ JZ070i002p00381.
URL http://doi.wiley.com/10.1029/JB083iB09p04459http://doi.wiley.com/10.1029/JZ070i002p00381
[60] P. Ponte Castañeda, J. Willis, The effect of spatial distribution on the effective behavior of composite materials and cracked media, J. Mech. Phys. Solids 43 (12) (1995) 1919-1951 (1995).
[61] I. Sevostianov, A. Giraud, Generalization of Maxwell homogenization scheme for elastic material containing inhomogeneities of diverse shape, Int. J. Engng. Sci. 64 (2013) 23-36 (2013). doi:10.1016/j.ijengsci.2012.12.004. URL http://dx.doi.org/10.1016/j.ijengsci.2012.12.004
[62] I. Sevostianov, On the shape of effective inclusion in the Maxwell homogenization scheme for anisotropic elastic composites, Mech. Mater. 75 (2014) 45-59 (2014). doi:10.1016/j.mechmat. 2014.03.003. URL http://dx.doi.org/10.1016/j.mechmat.2014.03.003
[63] V. Lebedev, Quadratures on a sphere, USSR Comput. Math. Math. Phys. 16 (2) (1976) 10-24 (jan 1976). doi:10.1016/0041-5553 (76) 90100-2.
URL https://linkinghub.elsevier.com/retrieve/pii/0041555376901002
[64] M. Bornert, T. Bretheau, P. Gilormini, Homogénéisation en mécanique des matériaux, Hermes science, 2001 (2001).
[65] S. Brisard, Sébastien Brisard's blog. https://sbrisard.github.io.
URL https://sbrisard.github.io/
[66] J.-F. Barthélémy, A. Giraud, F. Lavergne, J. Sanahuja, The Eshelby inclusion problem in ageing linear viscoelasticity, Int. J. Solids Struct. 97-98 (2016) 530-542 (oct 2016). doi:10.1016/j.ijsolstr.2016.06.035.
URL http://linkinghub.elsevier.com/retrieve/pii/S0020768316301500


[^0]:    *Corresponding author
    Email address: jf.barthelemy@cerema.fr (J.-F. Barthélémy)

[^1]:    ${ }^{1} \delta_{i j}$ is the Kronecker symbol equal to 1 if $i=j$ and 0 otherwise

[^2]:    ${ }^{2}$ Crack opening displacement tensor is also called in literature "crack compliance tensor" as introduced in [53]. The former name is preferred here since the latter may lead to a confusion with the fourth-order compliance contribution tensor ([54], [52]) of a crack which is also used in this paper. These notations are discussed in detail in [41].

